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I. INTRODUCTION AND SUMMARY 
The number of applications being found for high modulus fiber reinforced 
resin composites is steadily increasing in both aerospace and commercial areas. 
Their advantages - low density, high stiffness and high strength - are limited, 
however, by high cost and br~.ttle fracture in potentially large volume use 
areas such as gas turbine fan blades and helicopter rotor blades. Brittle or 
catastrophic fracture with drastic loss of dynamic properties, the result of 
impact by foreign objects, is at present the primary technical problem which 
must be solved before acceptance in such application areas is achieved. The 
desirable properties of composites make this a worthwhile goal. 
t-1ost studies of composite impact behavior have utilized the Charpy test to 
examine the effect of material variables and to compare the performance of differ-
ent composite systems. Work at United Aircraft Research Laboratories (UARL) has 
shown it is possible to increase the Charpy impact strength of graphite-resin 
composites through modification of interfacial strength by use of untreated 
graphite fibers, selection of fibers with high strength, or addition of glass or 
Kevlar-49 prepreg layers to form graphite epoxy hybrid composites (Ref. 1). 
Ballistic testing of hybrid composites conducted under NASA sponsorship (Ref. 2) 
has also demonstrated improved behavior for graphite fiber based composites. 
Other investigators have also found merit in the hybrid approach to improving 
composite impact behavior. Chamis, et al (Ref. 3) related impact resistance to 
combined fracture modes consisting of fiber breakage, fiber pullout and interply 
delamination. It was shown that the "hybrid composite", i.e. a composite which 
consists of two or more different fiber/matrix combinations, takes advantage of 
two or more of these failure modes to improve impact resistanc:e over the basic 
graphite-epoxy system. 
Simon (Ref. 4), using hybrid composites consisting of 15 percent Kevlar-49 
with MOUrnor II graphite, obtained a 50-60 percent increase in impact resistance 
compared to an all Modmor lIS epoxy composite but with some sacrj,fice in inter-
laminar shear strength. 
Because the hybrid fiber approach had demonstrated improvement in composite 
impact strength, a systematic investigation of graphite, S-glass and Kevlar-49 
hybrid reinforced resin composites was initiated at UARL under NASA-Le"Tis sponsor-
ship. The overall objective of the program was to design, fabricate and test 
unidirectional and angleply multifiber laminates for improved impact strength 
and other mechanical properties. Determination of differences in energy absorp-
tioncharacteristics and the relationship between multi-fiber laminate impact 
1 
I 
i. 
1 
t 
t 
i 
- """"_~"""'1_'''''' -- ~ ".1 
behavior and flexural and shear properties as well as a correlation between 
ballistic and pendulum impact response were part of the overall objective. In 
addition, the effect of high temperature matrix resins on these properties was 
investigated. 
This investigation was divided into four basic tasks. The initial phase 
was devoted to investigating multi-fiber dispersion variables and effects of hy-
brid fiber ply configurations on epoxy resin composite mechanical properties 
including shear, flexural and pendulum impact strengths. Task II involved the 
evaluation of thin angle-ply multi-fiber epoxy resin composites in both pendulum 
and ballistic impact as "Tell as the effect of composite thickness on pendulum 
impact strengths. The seven unidirectional hybrid fiber ply configurations which 
provided the best combination of impact, flexural and shear properties from Tasks 
I and II were subjected to further room temperature mechanical property charac-
terization in Task III. The same seven laminate configurations were further eval-
uated at low and elevated temperatures in Task IV using epoxy, polyimide and 
polyphenylquinoxaline resin matrices. Primary fibers throughout the investigation 
were AS and H!~ graphite while S-glass and Kevlar-49 III were the secondary fibers. 
In Tas~ I the hybrid fiber ply constructions investigated included interply, 
intraply, core-shell and inter-intraply. Particular emphasis was directed toward 
the intraply hybrid fiber configuration. The study showed that a tow-by-tow ply 
layup gave superior pendulum impact performance compared to a more dispersed 
graphite/glass or graphite Kevlar-49 reinforcement when tested in a standard 
Charpy impact configuration. In general, glass was found to be superior to Kevlar 
49 as a hybridizing fiber for strength and impact properties. Core-shell hybrids /. 
were characterized by large bending modulus reductions as the percentage of sec-
ondary fibrer '-Tas increased. The interply configuration resulted in the highest 
moduli for a given hybrid fiber content. The multi-fiber composite shear strength 
was genera.lly limited by the weakest link. It was also found that additions of 
Kevlar 49 to ID1S graphite did not provide significant improvements in impact 
(standard Charpy) regardless of ply construction. The best combination of 
Charpy impact strength and mechanical properties was given by the AS/S-glass 
intraply (tow-by-tow) system which showed no decrease in flexural strength or 
modulus, using up to 25 v/o glass, compared with homogeneous AS, with 134 to 
150 percent improvement in impact strength. Additional studies in Task I in-
cluded the effect of specimen thickness on instrumented Charpy impact properties 
and development of a computer program to facilitate calculation of the flexural 
modulus of hybrid composites. 
Three angle-ply configurations combined with three hybrid fiber constructions 
were uSi=d in Task II to evaluate ballistic vs pendulum impact response and the 
effect of composite thicknes s on the latter test • Results showed that at compos ... 
ite thickness levels below 0.508 cm (0.200 in.), the AS/S-glass intraply gave 
superior performance in pendulum impact. 
2 
The ballistic damage parameter (E/v) which relates projectile energy and 
composi te impact affected volume was found to provide correlation with 
pendulum impact results in that the same ranking order of composites based on 
data from both tests was obtf.~ined. 
To provide additional correlation between the ballistic and pendulum impact 
tests, sixteen unidirectional multi-fiber composites selected on the basis of 
composite modulus [above 131 GN/m2 (19 x 106 psi)] and having an average thick-
ness of 0.254 cm (0.100 in.) were impacted using the instrumented Charpy test. 
A different order of composite ranking was obtained compared to the results using 
standard Charpy specimens. Flexural and shear stress interaction diagrams were 
constructed to demonstrate the importance of span-to-depth ratio in the pendulum 
impact test. 
Based on the results of Tasks I and II, seven multi-fiber hybrid construc-
tions were selected for further mechanical property characterization in Task III. 
The epoxy resin unidirectional laminates included three HMS!S-glass (one intra-
ply and two interply), two AS!Kevlar-49 (intraply and interply), and two Asl 
S-glass (intraply and interply) systems. Tests included longitudinal tension 
and compression, transverse tension and compression and shear strength at room 
temperature. The same seven laminates were tested at -65°F, room temperature, 
300°F and 600°F for flexure, shear, and thin pendulum impact as well as coefficient 
of thermal expansibn in Task IV. Resin matrices included epoxy, polyimide (PMR-
15) and polyphenylquinoxaline. 
No unexpected results were obtained in the Task III evaluations. The 
transverse tensile compressive data reflected the difference between the intra-
ply and interply ply constructions in that with the latter only the fiber layers 
having the highest transverse strengths are involved in load transfer while in 
theintraply configuration the combined fiber content is involved. In contrast, 
the longitudinal properties were found to be relatively insensitive to ply con-
struction. The results from Task IV showed the AS!S-glass!polyimide intraply 
composite provided the best combination of properties over the temperature 
range investigated. 
II. TASK I - PRELIMINARY COMPOSITE LAMINATE COUFIGURATION SCREENING 
The four types of multi-fiber ply construction ~sed throughout the inves-
tigation are defined as follows: 
Laminate 
me Ho,.!.. 
1 
2 
3 
4 
Designation 
IntraplY' hybrid 
Inter-intraply 
(Interspersed) 
laminate 
lnterply hybrid 
laminate 
Selective 
reinforcement 
Description 
A unidirectional compOSite/ply made from 
a uniformly distributed mi~ture of primary 
and secondary fibers. 
A laminate made by stacking intraply hybrid 
with homogeneous primary fiber plys. 
A laminate made by stacking homogeneous 
primary with homogeneous secondary fiber plys. 
A laminate made by stacking homogeneous 
primary and secondary and/or intraply hybrid 
fiber plys in . "shell/core" or "core/shell tt 
configurations. 
The laminate design configurations which were tested during Tasks Ia and 
Ib are shown in Table I. 
Hercules Inc. graphite fibers, ID18 and AS types, were used throughout the 
investigation. Both types were coated with a medium sizing (epo~y composites 
only) by the manufacturer to enhance interfacial bond strength. Union Carbide 
T-f5 graphite was used in two of the inter-intraply type laminates. Ferro Inc. 
961 S-glass (20 ends), Owens-Corning 8-901 (12 ends), and DuPont Kevlar 49 III 
roving of 4560 denier were the hybridizing fibers. Kevlar 49 and PRD-49 are 
used interchangeably to identify this fiber. Dispersed fiber combinations were 
obtained from Heltra Inc. An air dispersion method was employed for spreading 
and partially mi~ing continuous filaments followed by drum winding the spread 
hybrid fiber tows. The fibers were combined in 8.9 cm (3.5 in.) wide, 0.00381 
cm (0.0015 in.) thick tows which were subSequently drum wound in a dry conditiot~ 
for three revolutions of the drum, then coated ,dth resin. This process was CO)1-
tinuedto produce a twelve ply prepreg tape. The epoxy resin composites were 
all fabricated using Union Carbide ERLA-46lf A with Furan hardener 9245 as matri~ 
resin by the procedure described in the appendix. 
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Composition 
Type 
1 
2 
3 
4 
5 
6 
T 
8 
9 
10 
Laminate 
Type 
1 
1 
1 
1 
1 
1 
2 
2 
2 
2 
.. 
Table I 
Laminate Design Configurations - Phase I 
Approx. Vol. %, Secondary Fibers 
Composit.ion o~ Inj:,raply HybKid Plys 
AS/S-glass 15 
HMS/S-glass 50, 25, 10 
AS/PRD-49-III 15 
HMS/PRD-49-III 50, 10 
S-filass 20/10 (Composition of the laminate 
AS/PRD-49-III is 70% AS, 20% glass, and 10% PRD) 
HMS/S-filass 20/40 (Composition of the laminate 
PRD-49-III is 40% HMS, 20% glass, and 40% PRD) 
AS/S S-glass 20 
S_glassP-T5 
S-glass 95, 90 
ID.ffi/HMS 20 S-glass 
S-glas s /T-T 5 85, 80 
S-glass 
Typical Laminate** 
Cross Section 
~AS or HJYlS 
1000000 ° I 
CPRD or glass 
gAS or EMS 
1({Q°o ° I 
PRD '(glaSS 
cOOOUOo 
AS or HMS 
°000° 0 
AS or HMS 
00°0° 
~ 
Composition Laminate 
Type Type Composition 
11 3 AS/S-glass 
12 3 AS/PRD-49-II1 
, 
i 13 3 HMS/S-glass ~ .. 
,I 
14 3 HMS/PRD-49-II1 I· f 
f 
~ Shell 
15 4 AS S-glass 
16 4 AS pRD-49-II1 
0'\ 
17 4 HMS S-glass 
18 4 HMS pRD-49-II1 
19a 4 HMS AS/S-glass 
19b 4 EMS AS/S-glass 
(Intraply 
Hybrid) 
Table I (Cont'd) 
Approx. Vol. %, Secondary Fibers 
or Intrapl~ Hyprid Plys 
20, 10 
30, 10 
50, 25, 10 
50, 10 
20, 10 
30, 10 
50, 25, 10 
50, 10 
Percentages of glass in the shell 
are 20 and 10%. The ratios of pri-
mary fibers in core to secondary 
fibers in shell* are 7.5: 1 and 15: 1-
Same as above (composition 19a) 
~ 
Typical Laminate** 
Cross Section 
PRD or ~lass 
AS or HMS 
PRD or glass 
AS or HMS 
PRD or glass 
PRD or glass 
AS or HMS 
PRD or glass 
Glass 
AS 
HMS 
Al;) 
Glass 
~ 
" 
; 
t' 
l 
R ~ 
l ~. 
fS 
~ 
r 
t 
~ 
I, 
I.·· ~. 
[ 
!' 
i 
: 
~ 
-.;J 
Composition 
Type 
20a 
20b 
Laminate 
TyI>e~ 
4 
4 
Table I (Cont' d) 
Gpmposition 
Approx. Vol. %, Secondary Fibers 
or Intraply_Hybrid Plys 
Core .§.Eill 
HMS HMS/S-glass 
m,ffi HMS!S-glas s 
(Intraply 
Hybrid) 
Percentages of glass in the shell 
are 50, 25, and 10%. The ratios 
of primary fiber in core to 
secondary fibers in shel~ are 3:1, 
9 : 1, and 15: 1. 
Same as above (composition 20a) 
*Two laminates to be fabricated and percentages of components to be selected 
after completion of testing of Type 1 laminates. 
**The typical laminate cross sections are for illustration purposes only and 
they do not represent the number of plies in the laminate. 
TYPical Laminate** 
Cross Section 
Glass 
IDIiS 
EMS 
HMS 
Glass 
1000 c 
liMS 
00000 
.. 
-
, 
The physical properties of all composites fabricated in Task I which includes 
density, volume percent each fiber, volume percent resin and voids and the ply 
construction employed are listed in Table II. 
2.1 Preliminary Multi-Fiber Dispersion Process Study 
To determine the effect of degree of hybrid fiber dispersion on intraply 
composite properties a series of Type 1 laminates (see Table I) Were fabricated 
using Heltra air dispersed multi-fiber reinforcement and the corresponding tow-
by-tow reinforcement made using the same fibers combined by co-winding techniques 
(see Appendix, section 8.4). Two of the five dispersed fiber combinations were 
made by mechanical methods at UARL rather than with the Heltra air dispersion 
system. 
The intention of the dispersed fiber approach was to achieve uniform mixing 
of the primary and secondary filaments. The air dispersion process easily 
spread the fiber tows employed but resulted in only limited intermixing of the 
fiber types. Thus, uniform dispersion was not achieved and the effects of total 
uniform fiber mixing on composite properties remains to be determined. 
The flexural, shear and Charpy impact strengths of the intraply hybrid fiber 
combinations made by dispersion (designated as Heltra) and those using the same 
fibers combined by co-winding techniques (side-by-side tow - designated DARL) 
are listed in Table III. 
2.1.1 Static Properties 
2.1.1.1 Shear Strength 
For composites having m.m graphite as the primary fiber, the tow-by-tow 
S-glass hybrids possessed increased shear strength over that of the primary fiber 
composite, whereas the dispersed S-glass hybridized composites do not; in fact 
the shear strengths were degraded. Kevlar 49 hydridization resulted in a slight 
decrease in composite shear strength regardless of construction, apparently re-
flecting the lower interfacial bond strength of Kevlar 49 epoxy. 
AS graphite primary fiber composites were, in general, much higher in shear 
strength than the HMS systems. S-glass again was the more effective hybridizing 
fiber compared to Kevlar 49. Comparison of composites No. 68 and 69, which 
incorporate both hybridizing fibers in AS graphite, further demonstrates the 
superiority of the tow-by-tow construction over the dispersed type. 
8 
.. ~ 
Table II I 
~.~ica,l Properties of EpoJIY-Hybrid Fiber Composites 
Fiber Fiber 
vlo Ratio Ratio 
Composition Density Total vlo vlo v/o via 
UARL No. !l:2e ~ ~ ~ Y.£,g ~Theo::;i:l (Actual! P1~ Construction 
NAS-6 11 1.65 AS-53. 7 39.7 0 AS-90 AS-B9.! 
.AS 0, ) -S-AS (4) 
s-6.6 5-10 S-10.9 
NAS-BC 11 1.69 AS-49.6 39.0 0 AS-BO AS-79.B A5.(2)-5-AS(l.)-S-AS(2) 
5-12.6 S-20 5-20.2 
NAS-BB 11 1.71 AS-53.5 34.3 0.3 .AS-BO AS-B1.7 AS(2,-S-AS(4}-S-AS(2J i 5-11.9 5_20 5-18.3 NAS-13 12 1.60 .AS-59. 2 35.4 0.25 AS-90 AS-92 AS (4)-PRD-AS{4) 
PRD-5.15 PRD-l0 PllD-S i NAH-14 12 1.54 AS-45.S 32.5 1.B AS-70 AS-69.7 AS-PllD-AS(2)-PRD-AS(2)-PED-AS l PRD-19.9 PllD-30 PllD-30.3 1 
• NAS-15 13 1.73 !IMS-61 29.3 2.6 11148-90 !IMS-B9.6 HMS( 4 )-B-liM5(4) ! 5-7.1 5-10 8-10,4 NAS-15A 13 1.69 liM5-56.8 37.7 1.4 liM5-90 11M5-93.25 !IMS(4)-B-llMS(l.) 5-4.1 8-10 s-6.75 ~ 
NAS-l0 13 1.77 liM8w 49.6 33.7 1.6 HMS-75 liMS-76.4 l!MS{2}-S-liMS(2)-S~liM5(2) '! 
8-15.4 5-25 5-23.6 I 
NAS-9 13 1.83 !IMS-34.0 36.7 1.5 llMS-50 liM5-54.3 llMS-8-!lMS-8_11V~_S 
B-28.6 B-50 s-45.7 
NAS-l2A 14 1.62 llMS-52.2 41.7 1.9 Jll>1S-90 !IMS-92.5 m~s(4 )-PllD-llMS(4) 
PRD-4.2 PED-l0 PRD-7.5 
NAS-lll 14 1.54 liMB-35.S 36.9 3.5 liMS-50 !II4S-5B.2 llMS-PllD-H148-PRD-HHS-PRD 
PRD-25.6 PRD-50 PRD-41.8 
• 
0.4 ! NAS-20A 15 1.69 AS-55.0 35.0 A8-90 AS-85 8(1/2)-AS(B)-S(1/2} t 5-9.6 8-10 B-15 I 
NAS-17 15 1.74 AS-55.2 30.3 0.2 AS-BO AS-79.4 8-AS(8}-8 i 8-14.3 8-20 8-20.6 
NAS-17A 15 1.69 AS-49.7 38.2 0 AS-80 AS-80.2 8-AS(B)-B 
8-12.2 8-20 8-19.B 
NAS-26A 16 1.57 AS-54.1 40.2 0.4 AS-90 AS-90,9 PRD(1/2)-AS(BJ-PRDC1/2) 
PRD-5·3 PRD-10 PllD-9.1 
NAS-23A 16 1.51 AS-38.8 35.9 2.0 AS-70 AS-62.5 • PllD(1_1/2)-AS(6)-PRD(1_1/2} 
PED-23.3 PRD-30 PRD-37.5 
NAS-24 17 1.74 llMS-57.8 30.8 2.6 11148-90 HM5-11G.7 5(1/2}-!lMS(8)_8(1/2) 
8-B.9 8-10 B-13.3 
NAS-16A 17 1.74 llMS-41.9 40.2 1.50 11148-75 HI4S-72 8-HMS(6)-S 
8-1G.4 8-25 8-28 
NAS-18 17 1.83 HMS-30.6 34.5 2.7 liM8-50 liMS-4B.7 8(2)-llMS(4)-5(2) 
8-32.2 8-50 B-51. 3 
NAS-2B 18 1.63 llM8-55.4 36.1 1.7 11MB-90 HM5-S9.1 PRD(1/2)-liMS(S)-?RD(1/2) 
PRD-G.B :'RD-10 PRD-lo.9 
NAS-19 lB 1.54 HMS-36.6 34.5 2.3 !II4B-50 l!J48-57.7 PRD(2}-HMS(4)-PRD(2} 
PRD-26.6 PRD-50 PRD-42.3 
NAS-34 19a-l 1.64 AS/liM5-55.0 3B.7 2.0 5-20 S{1/2)-AS{2)~HMB{7.5)-AS(2)-S(1/~} 
5-4.3 (Shell) 
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COIIIpoaition 
.. ~ Type 
NAS-35 19a-2 
liAS-55 20a-l 
20a-2 
2-IJARL" 
2-IJARL 
IIAS-36B 2-UARL 
ffAS-47 2-1l~lt,.. 
t1AS-47A 
IiAS-47Jl 2_Heltrab 
2-lIeltr .. 
11AS-47D 2-lIoltTl1 
IIAS-49 
HAS-46 
IIAS_64 8 
IIAS-66 
IIAS-64A 10 
IIAS-66A 10 
IIAS-68 5_Heltra 
5-UARL 
IiAS-74 
1 
3 
liAS-l. 
JlAS-5 
I/,lS-51 
Density 
...J&.... 
vfo 
Total 
E.!£,«!! 
1.65 AS/IIMS-57.0 
&-3.5 
1.68 
1.G5 
1.81 
1.dl 
1.63 
1.93 
1.64 
1.44 
1.46 
2.00 
1.91 
1.59 
1.66 
1.71 
1.68 
L60 
1.57 
1.60 
2.28 
IUl-55.6 
5-1.9 
IIHs-46 
8-16.3 
IU·!S-13.9 
S-19.7 
HMS-11.5 
5-21.2 
lU!.s-l;,l 
PRD-qO.2 
IUlS-20.1 
PRO-24.3 
HHS-~5.4 
PRO-2!.1 
T-75-4.0 
5-57 .3 
T-75-5.-
6-54.6 
T-75-6.6 
S-46.5 
T-15-13.0 
S--7.5 
AS-35.~ 
5-10.Z 
pRD-13.8 
M-31.0 
S-13.7 
PHD-1".5 
HHS-56 
5-12.5 
AS-S3.4 
5-10.5 
AS-59.3 
pRD-8.6 
AS-57;'1 
AS-59.0 
5_66 
1'80-66.9 
1It1-63 
T0I>1. II (Cont'd) 
vIc vlo 
~ ~ 
38.0 1.5 
40.3 2.0 
41.2 1.3 
37.6 0.1 
48.0 0.3 
38.4 
67.6 0 
Gl.2 1.0 
36 0 
30.8 1.3 
54.5 1.1 
48,6 2.4 
38.7 0 
40.0 o 
F1~er 
Ratio 
.f. 
(Theory) 
S-10 
(Shell) 
8-50 
(Shell) 
5-~5 
(Shell) 
lUiS-?5 
B-~5 
I!!lS-50 
S-5C 
IUlS-50 
8-50 
HMS-50 
5-50 
HM5-50 
PHD-50 
T-75-S 
5-95 
T-T5-I0 
5-90 
42.5 0.4 T-75-15 
5-85 
39.5 0 T-75-20 
5-80 
39.2 1.6 AS-70 
5-20 
PRD-IO 
32.8 2.0 1\5-10 
28.6 
0.8 
31.1 1.11 
41.8 0.5 
41.2 0 
34.0 
31.1 2.0 
36,4 0.6 
S-20 
PRO-IO 
1UlS-80 
5_20 
AS-80 
$-20 
AS-85 
S-15 
AS-85 
PRD-15 
AS-IOO 
AS-100 
5-100 
PRD-IOO 
HM-1OO 
aPrepros tape ""de by eo-winding alternating tow. ot :fibe ... 
"bbil~r .• ed tOVI as received from. Belt:, .. Inc. 
10 
I'lber 
Ratio 
vlo 
(Actual) rly Construct! on 
1U1-6S.2 8-H:$(6)-8 
.8_11,,8 
UJ.t..96.e S(1/2)-liH5U;,)-S(1/ZI 
lI-l.a 
IUlS-73.S S/IU-I ko-voI •• d tQIIl 
S-2G.5 
HM-28.8 S(4)!Hf.l (00-"0".<1 tQVl 
S-n.~ 
1lH-33.~ ~/HII (co-,,~u.d tov) 
5-66.8 
1UlS-41.' SilIlI dispers.d 'QII 
&-56.6 
liHS-35 s/HM dhp~rAed .ow 
8-65 
HM-'0.1 S/HM dllper .. d t<>ll 
S-S9.3 
HM-34.. :Wm (dhpersed tOlll 
5-55.6 
IUI-c4 SIIlH (41.1' .... 6 tov) 
S-36 
HMS-27.4 IUlS/rRO dlopeded ~"" 
PRO-12.6 
1U1-48,' !!I-!SIPHO diapers.d tov 
PRO-51.6 
IUlS-56.7 llIo1S!PRD co-wound tOY 
PHO.48.3 
T-75-6.S co-wound taw(l/3)/S 
5-93.5 
1-75-9 
5-91 
T-75-15.1 co-wound tOV(1/91/11 
8-64.9 
T-7S-2I.S 2 co-woUll4 tav(l/9)IS 
5-78,5 
AS-59.' lIe1tra diapers.d tov 
5-17.2 
PRD-23.4 
AS-56.S co-vound toy 
5_21.0 
PRD-22.2 
1!.\!S-81.S <o-vound tOll(1/11/!ll( 
5-18.2 
AS-83.7 co-vound tOV{1/1)/AS 
5-16.3 
AS-75 
5-25 
AS-87. S co-yound tow (11~ PRD-~9 tOIl) 
PRD-12.5 
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Composite 
No. 
47C 
47D 
36 
36B 
36A 
46 
49 
49A 
Table III 
Flexural and Shear Properties of Intraply Epoxy Hybrid Fiber Composites 
Intrap1y 
Construct7.2E:. a 
2-He1tra 
2-Heltra 
2-UARL 
2-UARL 
2-UARL 
4-UARL 
4-He1tra 
4-Heltra 
Fiber 
Ratio, v/o 
HMS-34.4 
s-65.6 
IllI1S-64 
S-36 
HMS-73.5 
s-26.5 
HMS-33.2 
s-66.8 
HMS-28.8 
S-71.2 
HMS-51.7 
Kevlar-48.3 
HMS-27.4 
Kevlar-72.6 
ID.ffi-48.4 
KeVlar-51. 6 
Short Beam 
Shearb 
MN/m2 il2si ) 
45.2 (6560) 
36.7 (5300) 
56.5 (8200) 
68.5 (9950) 
71.0 (10,300) 
43.5 (6300) 
45.6 (6625) 
45.5 (6600) 
Flexural Flexural Modulusc 
Strengthc 
GN/m2 (ksi) GN/m2 (psi x 106 ) 
1.13 (164.1) 116 (16.8) 
1.25 (181.5) 158 (22.95) 
1.18 (171) 142 (20.6) 
1.16 (168.5) 110 (16) 
0.87 (126) 82.6 (12) 
0.61 (88.5) 102 (14.8) 
0.716 (104) 86 (12.5) 
0.765 (Ill) 87.5 (12.7) 
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Table III (Cont'd) 
Short Beam 
Composite Intrap1y Fiber She arb 
No. Constructiona Ratiol vlo MN/m2
 (psi) 
68 5-He1tra AS-59.4 64.3 (9320) 
S-17.2 
Kevlar-23.4 
69 5-UARL AS-56. 8 84.5 (12,270) 
S-21.0 
Kevlar-22.2 
76 l-UARL AS-75 (18,250) 
S-25 
78 3-UARL AS-87.5 (14,900) 
Kevlar-12.5 
1 AS 124 (17,980) 
3a S-glass 109.2 (15,875) 
5 Kevlar-49 41.5 (6030) 
61 HMS 49 (7100) 
auARL = tow-by-tow prepreg; He1tra = dispersed fiber prepreg 
bShort beam shear, sin = 4/1 
cFlexural test - 3 point, SiD = 32/1 
~ 
Flexural Flexural Modulusc 
Strengthc 
GNLm2 (ksi) GNLm2 (psi x 106 ) 
1.86 (270.8) 127 (18.5) 
2.02 (293) 126 (18.3) 
1.9 (275) 125 (18.1) 
1.9 (275) 55.9 (8.1) 
0.68 (98.4) 75.8 (11) 
1.18 (172) 190 (27.5) 
.,;<t'·~''''-'f."".'~l,",-), .... "",,_'l"''' ,..: ..... ~ .. ~ , ••• , ..... ~ 
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2.1.1.2 Flexural Properties 
HMS graphite composites hybrid~zed with S-glass show no change in flexural 
strength compared to the prima~r fiber system regardless of intraply construction. 
On the other hand, introduction of Kevlar 49 results in a decrease in flexural 
strength relative to the HMS composite which is primarily due to the low flexural 
strength of the Kevlar 49 system. The data indicate that the dispersed construc-
tion may be slightly stronger in flexure than the tow-by-tow type. 
In the AS graphite composites the excellent flexural strengths of the pri-
mary fiber are retained using either hybridizing fiber or construction type. 
There appears to be little effect of ply construction on modulus when comparison 
of composites of similar fiber ratios and type are made. However, of particl~lar 
interest is the equivalent moduli obtained with the tow-by-tow AS/S-glass and 
AS/Kevlar 49 composites (No. 76 and 78). Based on fiber volume fraction the 
modulus of the latter composite should be higher (142 GN/m2 ). It is hypothesizeo 
that the lower than expected modulus of the I~/Kevlar 49 system is due to the 
contribution of the much lower shear modulus of Kevlar 49 vs S-glass. Shear 
deflection is not accounted for in the equations used to calculate flexural 
modulus. 
2.1.2 Dynamic Properties 
Compari!?on of the Charpy impact data of the comparable HMS/S-glass fiber 
ratios shows that the tow-by-tow construction gives composites having higher 
total impact energy (ET) than the dispersed fiber system. :B'or example, 36B > 
47C and 36 > 47D even though No. 36 contains less S-glass in the composite. 
Indication of why the tow-by-tow configuration provides improved impact 
resistance compared to the dispersed configuration can be seen in Fig. 1 which 
shows the end fractures of two of the above-listed composites. In the dispersed 
composites the shear fracture planes are, in general, uninterrupted and straight 
through the laminate. In the corresponding t>Dw-by-tow composites the shear frac··· 
ture planes are interrupted and angular in the area of the graphite fiber bundles 
which apparently requires a greater dissipation of energy in the fracture of the 
composite. Th::"s is also reflected in the load at initial fracture (Pl.) and maxi-
mum load (Pmax ) ettained in the load-time trace of the Charpy impact test as 
listed in Table IV, As pointed out above the short beam shear strength of the 
tow-by-tow construction was significantly higher than that of the dispersed fiber 
construction. On the other hand, the flexural strengths and modulus of the com-
posites of similar fiber ratios are essentially the same. This further demon-
strates the importance of shear beha,rior in the standard Charpy impact test. 
Pi was determined as being the point at which a change in slope occurred in the 
initial portion of the load-time curve. It was found that HMS/S-glass dispersed 
construction is similar in impact response to ffi~S alone while the tow-by-tow 
composite shows the influence of added S-glass. 
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HMS/Kevlar 49 composites did not give as wide a variation in impact strength 
between the two constructions. However, the tow-by-tow type did result in a 
higher Pmax load (Table IV) which was considerably higher than that obtained with 
either HMS or Kevlar 49 alone. This points out the value of the instrumented 
test for a complete characterization of a material's response to impact. These 
results are compatible with data obtained on interply and core/shell laminates 
which showed that the total Charpy impact strength of a unidirectional HMS/Kevlar 
49 composite is essentially the same regardless of the ply construction employed. 
These data are discussed below. 
The AS/S-glass/Kevlar 49 composites had the same load parameters for both 
types of construction. However, the Charpy impact strengths for the tow-by-tow 
construction was nearly double that of the dispersed system (Table IV) as was 
verified by a larger area under the load-time curve. Analysis of the fracture 
mode showed that, as in the HMS/S-glass laminates, the tow-by-tow construction 
resulted in angular, out of plane fracture paths. The two AS tow-by-tow laminates 
hydridized with S-glass (No. 76) and Kevlar 49 (No. 78), which gave nearly the 
same static properties, were -considerably different in impact response. The 
form~r system, having the typical out-of-plane shear fracture pattern, had twice 
the impact strength of the latter. 
It is hypothesized that the controlling factor in the Charpy impact behavior 
of these hybrid composites is the interlaminar shear failure of the weakest layer, 
generally HMS graphite or Kevlar 49. This results in similar Pi loads for the 
dispersed intraply and standard HMS composites as listed in Table IV. However, 
the tow-by-tow intraply composites, because of ply construction, have no continu-
ous layers of graphite; rather the graphite tows effectively line up at an angle 
to produce a graphite layer out of the plane of the interlaminar shear stress. 
This presumably requires a higher load to initiate and/or propagate failure. 
The standard Charpy test is carried out at a span-to-depth ratio of 4 to 
1 (L/h = 4). The results described above demonstrate the primary failure mode 
is shear. It is important to recognize therefore that standard Charpy impact 
data should be used to determine impact resistance levels only in applications 
which are to involve loads at low L/h ratios. ThE' effect .of using lower L/h 
ratios will be discussed below. 
Based on this evidence it was concluded that the side-by-side tow configu-
ration does provide a greater resistance to impact than the more intimately 
dispersed fiber reinforcement. Consequently, the remaining intraply composites 
of Type 1 and 2 laminates were fabricated using side-by-side tows. It should 
be noted, however, that uniform fiber dispersion should be better than the tow-
by-tow configuration in limiting catastrophic crack propagation due to fiber 
breakage. The Charpy specimens failed in part by delamination and complete 
fiber uniformity was not achieved, so the principle in actual fact was not tested. 
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2.2 Preliminary Composite Laminate Configuration Screening 
The mechanical properties, flexural, shear and impact, of the remainder of 
the composites fabricated in Task I are listed in Tables V-VIII. The data are 
presented by fiber types where possible, i. e. m~S/S-glass, HMS/Kevlar 49, AS/S-
glass and AS/Kevlar 49 so that a comparison o~ interply vs core-shell vs intra-
ply vs inter-intraply can be readily made for oach fiber combination • 
2.2.1 Static Properties 
2.2.1.1 Flexural Properties 
Flexural properties are one of the major criteria to be used in selecting 
laminate candidates for Tasks III and IV. A comparison of composite modulus and 
strength properties as a function of hybrid fiber type and percent hybridizing 
fiber revealed basic differences between the various laminate types. 
The effect on the flexural strength of HMS and AS interply systems hybridized 
with S-glass is shown in Fig. 2. With the interply configuration there is only 
a slight increase in flexural strength of the HMS system with increasing glass 
content with strengths being close to rule-of-mixture predictions. Analysis of 
the failure mode depicted in Fig. 3 showed that all the HMS/S-glass interply 
laminates failed in compression in the HMS layer. The compressive crack propa-
gated to the graphite-glass interface; shear failure then resulted. The change 
in the stress-strain curve was related to the distance the crack traveled. The 
homogeneous Hr~ laminate also showed compressive failure. It is apparent that 
the compressive crack has to propagate a certain critical distance before speci-
men failure is detected. Observation of the failed EMS specimen showed that this 
was at least one-half the specimen thickness. Presence of the higher strength 
glass interply layers blunts the crack propagation prior to reaching the critical 
crack length and specimen failure was not detected until shear delamination 
occurred. This happened at higher loads than with homogeneous HMS. 
The AS/S-glass interply laminates, in contrast to the HMS system, showed 
a decrease in flexural strength with increasing glass content, Fig. 2. Analysis 
o.f the failure mode shown in Fig. 4 revealed that a progression from tensile f 
failure in homogeneous AS to tensile/compression failure at 10 v/o glass to com-
pressive failure at 20 v/o glass had occurred. The initial failure occurred in 
the graphite to the graphite/glass interface where shear failure resulted. The 
progression from tensile to compressive failure with increasing glass content 
indicates that addition of glass to the AS graphite in the interply configuration 
results in a decrease in the compressive strength of the hybrid composite rela-
tive to the homogeneous AS laminate. This is reflected in lower flexural 
strengths for the multi-fiber system. 
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Table V 
Flexural, Shear and Impact 6trength. of HMS and '1'-75/6-Gl"s8 Composites 
Fiber 
Ratio 
Composition v/o 
~ • Type (actual) 
NAS-9 ::'3 
NAS-10 13 
NAS-15 
NAS-15A 13 
NAS-18 17 
l1AS-16A 17 
NAS-24 17 
IIAS-36 2-UARL 
lIAS-36A 2-UARL 
NAS-36B 2-UARL 
NAS-47 2-Heltra 
NA5-47A 2-Heltra 
lIAS-47B 2-Heltra 
IIAS-47C 2-Heltra 
l1AD-47ll 2-Heltra 
liAS-55 20a-l 
20 .... 2 
NAS-64 8 
NAS-66 8 
NAS-64A 10 
NAS-66A 10 
lIAS-72 9 
IIAS-61 
NAS-3A 
HMS-54.3 
s-45.7 
HM-7b.4 
5-23.6 
HM-89.6 
5-10.4 
HM-93.2 
6-6.75 
1iJ~-48. 7 
8-51.3 
HMS-72 
6-28 
HH5-86.7 
5-13.3 
HMS-73.5 
5-26.5 
HMS-28.8 
6-71.2 
HMS-33.2 
6-66.8 
1lMS-41.4 
tl-58.6 
HMS-35 
s-65 
HMS-59. 4 
s-45.6 
HMS-34.4 
5-65.6 
Hllil-64 
5-36 
HMS-85.2 
5-14.8 
HMS-96.8 
5-3.2 
T-75-6.5 
5-93.5 
T-75-9 
5-91 
T-:75-15.1 
5-84.9 
T-75-21.5 
5-78.5 
1U~-81.8 
5-18.2 
HI~-63 
5-66 
Bshort beam shear SID '" 4/l. 
bFlexural test - 3 point, sIn = '32/l. 
cFlexural test - 4 point, SiD = 32/1 
Short Beam 
Shear 
54.6 (7940) 
55.8 (8100) 
(6600) 
38.2 (5500) 
60.2 (8730) 
56.0 (8130) 
43.6 (6330) 
(8200) 
(10,300) 
68.5 (9950) 
(8050) 
53 (7700) 
(8100) 
45.2 (6560) 
36.7 (5300) 
37.4 (5430) 
40.5 (5875) 
79.6 (12,680) 
79.6 (12,700) 
(9720) 
(11,600) 
(5320) 
('7100) 
Flexuralb 
Strength 
GN/m~ (ksi) 
1.38 (200.8) 
(191) 
1.26 (183) 
1.30 (183) 
1.36 (lg8) 
1.26 (183) 
1.18 (171) 
0.87 (126) 
1.16 (168.5) 
f).8 (116) 
0.78 (114) 
0.8 (116) 
:1..13 (164.1) 
1.25 (181.5) 
1.18 (171.5l 
0.91 (132) 
1.36 (197) 
1. 56 (226) 
1.22 (178) 
1.18 (172) 
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Flexuralb 
Hodulus 
120.5 
210 
214 
190 
82.8 
111 
157 
82.6 
HO 
55.2 
60.6 
71.6 
116 
138 
64 
76 
74 
82.9 
174 
190 
(17.5) 
(28.7) 
(31) 
(12.0)C 
(10.6) 
(16.1) 
(22.8) 
(20.6) 
(12) 
(16) 
(8.0) 
(8.8) 
(10.4) 
(16.8) 
(22.95) 
(20.0) 
(22.3) 
(11) 
(10.7) 
(12) 
Charpy Impact 5pecim.ns 
Strength 
Density (face) 
~ ~ (rt-lbo) 
1.84 
1. 75 
1.86 
1.69 
1.66 
1.76 
1.85 
1.85 
1.59 
1.67 
1.80 
1.70 
1.64 
1.99 
1.90 
1.92 
1.88 
1.74 
1.'(0 
28 (20) 
25.2 {18) 
16.8 (12) 
44.8 (32) 
22.4 (H,) 
12.6 (g) 
54.6 (39) 
(36) 
39.2 (28) 
38.4 (27.5) 
33.6 (24) 
28.6 (20.5) 
18.2 (13) 
63.6 
(16} 
16.8 Cl.2} 
72.7 <!;2) 
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~. Table VI 
Fle~al, Shear and ImJ;lact Strengths of HHS-PRD-49-III ComJ;losites 
Fiber Short Beam CharEl ImEact SEecimens 
Flexuralb 
b 
Ratio Shear Flexural Str
ength 
Composition vlo Stren~h Stren~th Modulus Densit
y (face) 
UARL No. Type (Actual) MN/m2 (Esi)a GN/m2 (ksi) GN/m
2 (psiXl06 ) g/cc Joules (ft-lbs) 
NAS-'12A 14 HMS-92.5 64.5 (9350) 1.19 (173) 185.5 (26.9) 1.62 1
5.4 (11) 
" ~ 1 PRD-7.5 
NAS-lll 14 HMS-58.2 38.8 (5640) 1.0 (145) 123 (17.8) 1.49 
18.9 (13.5) 
PRD-41.8 
NAS-28 18 HMS-89.1 52.8 (7640) 1.28 (186) 174 (25.3) 1.59 
13.65 (9.75) 
PRD-I0.9 
0--
NAS-19 18 HMS-57.7 39 (5650) 0.895 (130) 86 .• 2 (12.5) 1.
48 20 (14.25) 
1-' PRD-42.3 
\0 
NAS-46 4-UARI. HMS-51. 7 43.5 (6300) 0.61 (88.5) 102 (14.8) 1.46
 18.9 (13.5) 
PRD-48.3 
NAS-49 4-Heltra BMS-27.4 45.6 (6625) 0.716 (104) 86 (12.5) 1.
42 20.3 (14.5) 
PRD-72.6 
NAS-49A 4-Heltra HMs-48.4 45.5 (6600) 0.165 (Ill) 87.5 (12.7) 
1.42 16.8 (12) 
PRD-51.6 
NAS-5A PRD-66.9 41.5 (6030) 0.68 (98.4) 75.8 (11) 1.
38 35 (25) 
L-
ashort beam shear SID = 4/1 
bFlexural test 3 point, SID = 32/1 
j. CAverage of two tests , 
i 
f 
il 
'1 1 
~ I 
! ~:: -;0iiI, • a Ill't8. , ilJk.lIf?! f ..... -. ~"-~-""'''',,>-.q \-~"L~-·-n.""N\"''''''·'
''''~'''·;;+;·_·V"''''' 'O .... ~I;t_~t<"~F,,1~1J~ •• ' "1."'<"". - ". 
'. ,-,..-' 'i ~-'~"'''''" ....... ~ ..... '~'f"'~._. 
Table VII 
Flexural, Shear and Impact Strengths 01' AS S-Glass Composites 
t Fiber Short Beam Ghar£l Im~act SEecimens 
Ratio Shear :Flexural Flexural 
Strength 
Composit;i.on via Strens:!!h Stren!ljthO t.lodulusb Density {face) 
UARL Ho. Type (A~tua1) MN/mZ (psi)a GN/mZ (ksi) GN/m
2 (psi:<l06 ) UARL No. g/cc ~ (ft-1bs)d O~ 
NAS-6' 11 AS-89.1 104 (15,125) 1.68 (244) 123 (17.8) NAS-7 1.71
 42 (30) ~ ~-
S-10.9 ~% 
:1,,[;-8 11 (207) (17.55) 
liAS-8c 11 lIS-79.8 109 (15,800) 1.475 (214) 109 (15.8) NAS-21 1. 7
5 44.8 (32) ~~ 
S_20.2 -.a~ 
NAS-BB II AS-8l.7 96 (13,940) 1.47 (213) 123.2 (17.9)c NAS-2lA
 1.72 44.8 (32) \\ S-18.3 (15.8) 
JiAS-20A 15 AS-85 99.5 (14,400) 1.91 (277) 99.5 (14.4) NAS-
38 1.66 .30.8 (22) 
S-15 
NAS-17A 15 AS-80.2 98 (14,240) 1.66 {241. 5; 82 (11.9) NA
S-22 1. 74 46.2 (33) 
5-19.8 
ro NAS-35 19a-2 AS/HM-57.0 59.6 (8640) 1.63 (237) Ill. 8 (16.2) NAS
-53 1.<55 17.5 (12.5) 
0 8-3.5 
NAS-34 19a';'1 AS/lU4-55.0 55.8 (8100) 1.5 (218) 109.5 (lS.9) li
AS-52 1.66 19.6 (14) 
s-4.3 
NAS-68 S-l1eltra AS-S9.4 64.3 (9320) 1.S3 (222) 92.; (13.4) ~rAS-70 
1.54 21 (IS) 
S-17.2 
PRD-23.h 
;fAO-69 5-UA.Rt AS-56. 8 84.5 (12,270) 1.68 (242.5) 95 (13.8) :iAS-71 
1.57 39.2 (28) 
S-21.0 
Pl'/D-22.2 
tiAS-74 7 AS-8.3.7 (18,380) (238) (15.4 ) NAS-
75 loU 3'(.8 (27' 
3-16.3 
:fllli-76 l-UARL AD-75 (18,250) (270.1» (18.5) 
!iAS-'(7 1.77 ')1.9 (37.5) 
S-<:5 
ilA:"~+-+l .11::1-57. '( 70.6 (llJ.2;O) 1).99 {l44)c 9(} (1
1'.3)(' !YA~~-6( 1.64 24.5 (It'.O) 
klQ-.la A3-59 l..;lt.O {17,9BO} 1.9 (275. 12~ (11;.1
) 1.1(; 
nt'k1~31~ ~)-t~ t: ~ :it" 
'"'1 .l~" ~. ,- \1~,,8'F) 5':>.9 (B.1)'; r~A~·_r't2 1.91 13.S (5~'.5
) 
Il.;'"t: !:'t- b'~8If, shear - :; il '" 4: 1 t~£··1':.""xlA.r!-1 ,!:,"
.:t<t - :.-:toint, :..~/~\ = 5~/.1 
~'rl~t.ufnl t,~~t- ...... ~-r-o'int" .. ~ F' := ?, .: 1 d';v;i';!"f;'i':P or t..~H":· t,l';.:~t,:...· 
.. 
'" 
~ 
t", ... ~:.., •• "./"~..,~.~.".~l'i....4"","~",_!. _;<,. •• c 
" 
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Table VIII 
Flexural, Shear and Impact Strengths of AS-PRD.49-III Composites 
r~ , Fiber Short Beam Char;El ImEact S;Eecimens t 
~ Ratio Shear Flexural Flexural Strength l , Composition vlo Stren~th Stren~thb Modulus Density (face) ~t 
" UARL No. Type ~ (Actual) MN/m2 (Esi)a GN/m2 (ksi) GN/m2 (psixl06) g/cc Joules (ft-lbs)d 
f NAS-l3 12 AS-92 74.5 (10,800) 1.63 (237.5) 125 (18.2)c 1.59 29.4 (21) ii PRD-8 134.2 (19.5)b ~. r 
NAS-14 12 AS-69.7 60.5 (8760) 1.475 (2l4) 121.5 (17.6)c 1.56 33.6 (24) 
PRD-30.3 116.0 (16.8)b 
NAS-26A 16 AS-90.9 103 (14,900) 1.46 (212) 102 (14.8)b 1.61 32.2 (23) 
I\) 
I-' 
PRD-9.1 
NAS-23A 16 AS-62.5 86.2 (12,500) 1.33 (193) 75.8 (ll)b 1.50 35 (25) 
PED-37.5 
NAS-78 3-UARL As_87.3 (14,120) (293) (18.3) 26.6 (19) 
PRD-12.7 
NAS-5A PRD-66.9 41.5 (6030) 0.68 (98.4) 68.95 ( 11)b 1.38 35 (25) 
i 
f 
70.6 (144)C (14.3)C ! NAS-1 AS-57.7 (10,250) 0.99 125 1.64 22.4 (16) & : 
I NAS-1a AS-59. 0 124.0 (17,980) 1.9 (275.5) 55.9 (18.1) 1.70 
SShort beam shear - SiD = 4/1 
bF1exural test - 3-point, SiD = 32(1 
cFlexura1 test - 4-point, sIn = 32/1 
Ii dAve rage of two tests 
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FLEXURAL STRENGTH VS V /0 HYBRID 
AS/S-GLASS AND HMS/S-GLASS INTERPL Y COMPOSITES 
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The decrease in strength with increasing glass content is related to the 
dilution of' graphite filaments with equ:lvalent strength but lower modulus glass 
filaments in the area of high tensile or compressive stress. Due to the higher 
modulus of the AS graphite 107hich carries a greater proportion of the load, the 
lower the graphite fiber content the lower will be the load carrying capability. 
The effect of cot'e-shell and intraply constr1~ction on flexural strength for 
the AS and H11S S-glass systems is shown in Fig. 5. As with the interply construc-
tion there are minor changes in strength from the l:ule-of-mixtures prediction in 
the HMS/S-glass hybrids in either the core-shell or intraply types below 30 v/o 
glass content. Above this level both types fall below the predicted strength 
although not below that of homogeneous ID4S. Failure in both constructions is 
compression. The flexural strength of the AS/S-glass core-shell laminates de-
creases with increasing glass content as did the interply type. However, the 
intraply flexural strengths did not drop relative to the homogeneous AS laminate. 
The core-sIlell composites failed in compression or tension similar to the inter-
ply failures, while the intraply exhibited tensile failure in the graphite tows. 
The combined inter/intra systems, Types 7 and 9, resulted in composite 
properties intermediate between the two separate types. No strength advantage 
was found in using the combined form. However, the ability to tailor specific 
impact properties at a given level by altering ply construction alone may be 
of use in design requirements for particular applications. 
The flexural strengths of the HMS/Kevlar 49 composites decreased with in-
creased hybrid fiber content irrespective of ply construction as illustrated in 
Fig. 6. Failures in all cases were of the compressive-shear type. This apparently 
reflects the poor compressive strength of Kevlar 49 relative to S-glass. 
The AS/Kevlar 49 system, Fig. 7, behav~d similarly vrith the exception of 
the intraply tow-by-tow construction. In this case flexural strengths were 
essentially equivalent to homogeneous AS as were the intraply AS/S-glass lami-
nates. Failure occurred in tension, compression or both depending upon Kevlar 49 
content similar to the glass systems. 
Hybrid composite modulus changes with increasing S-glass or Kevlar 49 content 
were as predicted with one exception. Comparing the HMS hybrids, Figs. 8-10, the 
data show a decreasing modulus with increaSing hybrid content with both S-glass 
or Kevlar 49 irrespective of ply construction. This would be expected since the 
moduli of Kevlar 49 and S-glass (20 x 106 psi and 12.5 x 106 psi respectively) 
are much lower than that of HMS (55 x 106 psi). In general, the core-shell oon-
i'igurations showed the greatest decrease in flexural modulus since the outer 
shell contained the low modulus hybridizing fiber. If that arrangement was re-
versed and the shell was reinforced vrith the high modulus fiber, the composite 
bending modulus would be much less affected by the addition of hybrid fiber to the 
inner core. This behavior is in contrast to what would be expected under axial 
loading where Inoduli would be relatively insensitive to the position of the fibers 
within the laminate. The interply and intraply configurations did not differ 
greatly in their effect on bending modulus. 
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The AS hybridized laminate response shown in Figs. 11-13 was somewhat 
different; modulus again decreased with increasing S-glass or Kevlar 49 content 
with the exception of the intraply (toW-by-tow) construction. It has also been 
shown in othe~ government sponsored programs that moduli of .AU or T-300 graphite 
S-glass composites do not drop in the intraply construction up to 25 v/o S-glass. 
This was true for both secondary fibers. As vrith the HMS hybrids the core-shell 
configurations decreased in modulus most rapidly. The interply AS S-glass or 
Kevlar 49 composites gave little modulus change up to 10 v/o hybrid fiber com-
pared to homogeneous AS. Above this level, rule-of-mixture moduli were obtained. 
It is interesting to note that with the AS/S-glass combination whose fiber 
moduli ratio is approximately 3/1, no change in modulus in the intraply con-
struction was found while the ID~S/Kevlar 49 system with a similar moduli ratio 
shows a rapid decrease in composite modulus in the same configuration. 
As expected, because of the high glass contents, none of the T-75/S-g1ass 
systems, Types 8 and 10, Table V, achieved the minimum modulus limit of 131 
GN/m2 (19 x 106 psi). It is believed that addition of sufficient T-75 fiber to 
meet the modulus requirement would undoubtedly result in Charpy impact strengths 
in the same range or possibly lower than comparable HMS/S-glass systems. 
The combined inter/intraply systems, Types 7 and 9, resulted in composite 
properties intermediate between the two separate types. No strength advantage 
was found in using the combined form. However, the ability to tailor specific 
impact properties at a given level by altering ply construction alone may be of 
use in design requirements for particular applications. 
With few exceptions during testing in flexure, shear failure accompanied 
the tensile of compressive failure in all of the hybrid laminates regardless 
of ply construction. Interlaminar shear strength tests at a span-to-depth ratio 
of 4/1 resulted in shear failure in all cases. 
With the 1ll4S/S-g1ass interply laminates no appreciable change in shear 
strength compared to homogeneous HMS, as seen in Fig. 14, with the possible 
exception of 10 v/o glass composites were noted. There does appear to be a 
slight effect on shear related to the position of the glass interply layer rela-
tive to the area of high shear stress. This probably accounts for the somewhat 
lower shear strength in the 10 v/o glass laminates since the glass layer is in 
the center of the composite. However, the 50 v/o HMS/S-glass laminate which 
would also have a graphite/glass interface in the center of the composite gave 
shear values slightly lower than the 25 v/o type, as would be predicted, but 
higher than the 10 v/o glass systems. The shear strengths of the HMS/S-glass 
core-shell laminates, Fig. 15, showed a slight increase with increasing glass 
content. 
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All the interp1y and core-shell AS/S-g1ass composites gave a decrease in 
shear strength relative to homogeneous AS with little effect of glass content 
noted. The <~ore-she11 construction had, in general, slightly lower strengths 
than the corresponding interp1y type. The intrap1y (tow-by-tow) composites, 
however, gave shear strengths equivalent to homogeneous AS as did the inter-
intrap1y laminate, Type 7. Incorporation of m~s graphite or Kev1ar 49 into the 
AS/S-g1ass system resulted in lower shear strengths relative to the primary AS 
fiber. These data are shown in Fig. 16. 
The low shear strength of homogeneous Kev1ar 49 in most instances resulted 
in shear strengths in all HMS composites somewhere between that of Kev1ar 49 
and homogeneous m~s irrespective of ply construction. The one exception was 
the interp1y laminate containing 7.5 vlo Kev1ar 49. Sufficient data are not 
available at present to determine if such an improvement in shear strength is 
real. 
All shear strengths of AS laminates hybridized with Kev1ar 49 were lower 
than the homogeneous AS composite with the core-shell and intrap1y (tow-by-t,)w) 
type at 9-13 vlo Kev1ar 49 concentration providing shear strengths in the 14,000 
psi range. Repeat of the interp1y construction in Task II in this concentration 
range also resulted in shear strengths of this magnitude. In general, the shear 
strength of As/Kev1ar 49 laminates decreases with increasing secondary fiber 
content regardless of construction type. 
2.2.2 Dynamic Properties - Analysis of Charpy Impact Data 
The application of the instrumented Charpy pendulum impact test has made it 
possible to more fully characterize composite impact performance. Of particular 
importance are the loads sustained prior to initial fraction (Pi) and the maximum 
load prior to failure. For some load controlled applications this parameter 
could conceivably be more important than total energy absorption considerations. 
The energy which each multi-fiber type can absorb prior to maximum load or 
catastrophic failure is an important criterion for ranking of the hybrid composites. 
In the following paragraphs the effects of hybrid construction on load 
capacity, impact absorption energies, the relationship of impact energy to com-
posite flexural modulus as well as the effect of specimen thickness on Charpy 
impact performance are described. 
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2.2.2.1 Load Capabilities 
2.2.2.1.1 HMS/S-glass and T-75/S-g1ass Composites 
The load at initial fracture of the intraply composites (Type 2) remains 
essentially constant for each compcsition type, even though the percentage of 
hybrid fiber varies over a large range (Table IV). This same phenomenon is also 
evident in the interply HMS/S-glass composites (~ype 13) but not in the core/shell 
HMS/S-glass composites (Type 17). In the latter composites, Pi and Pmax increase 
with increasing glass content. These data are listed in Talile IX. The data for 
the standard HMS and S-glass composites are shown in Figs. 17 and 18. 
It is hypothesized that the controlling factor in impact behavior of these 
hybrid composites is the interlaminar shear failure of the HMS graphite layers. 
This results in similar Pi loads for the Heltra intraply, interply, and standard 
m~s composites as listed in Tables IV and IX. However, the UARL intraply com-
posites, because of ply construction, have no continuous layers of graphite; 
rather the graphite tows effectively line up at an angle to produce a graphite 
layer out of the plane of the interlaminar shear stress. This presumably would 
require a higher load to initiate and propagate failure (Fig. 1). 
Identification of the Pi load in the core/shell type is difficlut because 
of nonlinearity in the initial portion of the curves, thus initial fracture may 
occur at lower Pi's than indicated. 
The Pmax loads 01' the hybrid composites are apparently related to the thick-
ness and ply construction of the segments formed after the initial delamination 
has occurred. Thicker sections containing higher percentages of glass are 
capable of sustaining higher loads. The interply composites (Type 13) appear 
to give anomalous results in this regard. The Charpy impact strength of the 
T-75/S-g1ass (side-by-side tow) composites reflect the high percentages of glass 
present and as expected with increasing T-75 content the impact strength de-
creases. There is little effect on Pi or Pmax below a 20 v/o T-75 content. It 
is believed that addition of sufficient T-75 fiber to meet the modulus require-
ment would undoubtedly result in Charpy impact strengths in the same range or 
possibly lower than comparable RMS/S-gla,ss systems. 
No advantage was found in the combined inter/intra type construction 
(NAS-72, Type 9) over the interply (Type 13) systE~m. This is presumably due 
to the fact that they both contain continuous HMS graphite layers which would 
result in similar total impact characteristics. 
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Table IX t 
Charpy Impact Loads of H11S!S-Glass and T-7)/S-Glass l':Foxy Laminates i 
i 
~ 
l<'iber Charry Impact 1. I 
Ratio :7 t renp-th 
UARL No. Composition vlo Pi I-'max «('xperfment!~l ) 
(Impact) Type (actual) newtons (Ibn) Ilewtons (lbs) .'ou1e;; (;'t-1L!, j 
NAS-15A 13 HMS-89.6 3110 (700) 5780 (BOO) ,.. .. ') 1, t""C. t (it? j 
s-10.4 
i 
-\;-, 
NAG-I0 13 Hl·1S-76.l1 2665 (600) ~5f;O {1250j ;·:9.4 t .... ,~: I ... ' .... 1 i S-23.6 
• t 
NAS-9 13 HI·IS-511.3 3110 (700) 5780 (1300) 35 (;::5 ) 1 
s-45.7 i 
iIAS_24 17 liMS-86 • ., 1775 ( /100) 3770 (850) 12J {9 1 
S-13.3 
('{OO) 53/10 { l~_(JO} dJ '. if I 1 ~r.A8-16A 17 HlilS-72 3110 1 
8-28 t 
"I 
i 
HI4S-48. '( 53/10 (1200) (~:5UO ) (31 .', ) I ilAS-18 17 11,100 ',1 
8-51.3 § 
i 
tlAS-72 9 Hl.18-56 2490 (560J 2)190 (560) 2?1; (H~) ~ 
S-12.5 J 1 
NAS-64 8 'f-75-6.5 53/10 (1200) 5780 (1300 ) 70 J t: "'> ., ")" I t 
8-93.5 1 1 
.. 
NAS-66 8 T-'(5-9 4900 (noo) 53ho (1200) 5" • 4 (l.1.U) 
S-Yl , 
; 
NAS-64A 10 T-'(5-1;;.1 5300 (1l90 ) 'Y{OO (l;~"jU ) (~ .. ~. t) J {II).:: } t 
::;-tl4.Y j 
1 
i'lAH-66A 3560 (BoO) 36/10 (28o) {ii .~. 10 T-75-21.5 51.;: I 
8-78.5 .i l 
I 
IliiS- 55 20u-l HMS-85.2 2220 (500) 211ltO (~50) ~ ~L -":";. (:ll~ ) j &.-.,jI.L. 
3-14.8 ~ ~ 
l 
i-IAS-54 lH4S-96.8 (500) {iOO) 113.2- (1::» 200.-2 2220 3110 ~ 
3-3.2 ! 
1 
NAS-58 20a-3 HMS- 3330 (750) 4000 (~100 ) 15. 4 (11 ) i 
o- j 
NAS_63 Rl4S-63 2890 (GOO) 3550 (800) 16.8 (lP) I l 
1 
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2.2.2.1.2 HMS/Kevlar 49 Composites 
As previously discussed in section 2.1.2, the impact strengths and loads of 
HMS/Kevlar intraply composites show little change with varying secondary fiber 
content. The interply construction did produce higher Pmax loads, the same as 
with the tow-by-tow intraply type with no improvement in total impact, Table X. 
As with the HMS/S-glass systems the controlling factor in impact behavior of these 
hybrid composites appears to be the interlaminar shear failure of the HMS graphite 
layers. 
The load-time curve and impact specimen of the Kevlar 49 composite are 
shown in Figs. 19 and 20. 
2.2.2.1.3 AS/S-Glass Composites 
A distinct difference in the Pi loads of the interply (Type 11) and core/shell 
(Type 15) AS/glass systems was found, Table XI. In the former case the Pi load 
increases with increasing glass content while in the latter, Pi load decreases 
with increasing glass. This effect appears to be related to the position of the 
AS/S-glass interface relative to the plane of maximum shear stress through the 
center of the composite. That is, the nearer the center the lower will be Pi. 
The interply, 10 v/o glass, system is made by stacking (AS)4S(AS)4 segments having 
the interface at the center, while the interply 20 v/o glass composite has an 
(AS)2S(AS)4S(AS)2 se~uence with only graphite plys at the center. In the corel 
shell type the thicker the shell the nearer the interface is to the composite 
center giving a lower Pi. The 19a type composites having the AS/glass shell and 
m~s center behave in the same manner as the interply systems, i.e. Pi increasing 
with glass content and are very similar to NAS-24 and -16A, the core/shell HMS/S 
composites (Type 17, Table IX), which show increasing Pi and Pmax with increasing 
glass content. 
The Pmax of all the systems increases as glass content increases. As with 
the Hr~/S-glass composites this is apparently related to the thickness and ply 
construction of the segments formed after the initial delamination has occurred. 
The thicker sections which contain higher glass contents are capable of sustaining 
higher loads. 
The composite properties demonstrated by the intraply (tow-by-tow) Type 1 
composi te, NAS-76, mal'i.e this AS/S-glass system a prime candidate for further 
study if the modulUs requirement could be met. The Charpy impact strength and 
load capability was the highest of any AS/S-glass system. The fracture pattern 
of the impacted composite had the out-of-plane shear fracture paths typical of 
the tow-by-tow type construction. The load-time trace and impacted specimen are 
shown in Figs. 21 and 22. 
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• Table X 
Charpy Impact Loads of HMS/PRD-49-III Epoxy Laminates 
Fiber Charpy Impact 
Ratio Strength 
t Composition v/o p. Pmax (experimental) 
" 
~ l 
UARL No. T</pe (actual) Newtons (lbs) Newtons (lbs) Joules (ft-lbs) 
I 
! NAS-12A 14 HMS-92.5 3340 (750) 5780 (1300) 15.4 (11) 
PRD-7.5 
NAS-IIA 14 HMS-58.2 3780 (850) 5780 (1300) 18.9 (13.5) 
PRD-)+l.8 
,.j::'"" NAS-28 IS HMS-89.1 17S0 (400) 3780 (850) 13.65 (9.75) 
'Vl PRD-I0.9 
NAS-IS IS IDv1.8-5 T. 7 2220 (500) 2670 (600) 20 (14.25) 
PRD-42.3 
NAS-63 HMS 2670 (600) 3560 (800) 16.8 (12) 
NAS-5A PRD-49 3160 (710) 3760 (845) 35 (25) 
! 
2600 
LOAD 
(LBS) 
o 
INSTRUMENTED CHARPY LOAD-TIME TRACE 
-j 
NAS-5A 
KEVLAA 49·111 
-... I"-:. 
"-
TIME (IlSEC) 
46 
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~ Table XI 
Charpy Impact Loads of AS/S-Glass Epoxy Laminates 
Fiber Charpy Impact 
Ratio Strength 
Composition v/o Pi Pmax ( experimental) 
UARL No. Type (actual) Newtons (lbs) Newtons (lbs) Joules 1ft-lbs) 
NAS-6 11 AS-89.1 5,550 (1250) 10,680 (2400) 42 (30) 
S-10.9 
NAS-8c 11 AS-79.8 11,110 (2500) 14,240 (3200) 44.8 (32) 
S-20.2 
NAS-20A 15 AS-85 3,560 (1450) 8,000 (1800) 30.8 (22) 
.J:-- S-15 
D:l 
! NAS-17A 15 AS-80.2 3,560 (1600) 10,220 (2300) 46.2 (33) 
S-19.8 
NAS-35 19a-2 AS/HM-57 .0 2,220 (500) 4,120 (925) 17.5 (12.5) 
S-3.5 
NAS-34 19 a-I AS/HM-55.0 5,120 (1150) 7,120 (1600) 19:6 (14) 
s-4.3 
NAS-74 7 .. AS-83.7 _ 12,400 (2800) 12,400 (2800) 37.8 (27) 
s-16.3 
NAS-76 1-UARL AS-75 12,400 (2800) 12,400 (2800) 52.5 (37.5) 
S-25 
NAS...lA AS 11,580 (2600) 11,580 (2600) 24.5 (17.5) 
NAS..:3A S-glass 10,000 (2250) 10,450 (2350) 73.5 (52.5) 
l 
11:,': 
3200 
LOAD 
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o 
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o 
INSTRUMENTAL CHARPY LOAD-TIME TRACE 
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2.2.2.1.4 AS/Kevlar 49 Composites 
Unlike the addition of Kevlar 49 to EMS graphite when AS graphite is combined 
with Kevlar 49, there is a relatively large change which occurs in the Pmax level, 
particularly in the interply (Type 12) composites, with little effect on Pi, 
Table XII. The higher the percentage of Kevlar 49 the lower the Pmax capability. 
This would be expected in light of the low Pmax obtainable w'ith Kevlar 49 alone. 
This effect is probably related to the poor compressive properties associated 
with Kevlar 49 systems. This is in contrast to the AS/S-glass interply composites 
where an increase in glass content resulted in a higher Pmax load capability. 
Comparison of the impact properties of the interply, core-shell, and intraply 
AS/Kevlar 49 systems show little change in total impact characteristics either 
with Kevlar l t9 concentration Or ply construction. The Pi and Pmax loads of the 
core-shell type are, however, higher than the interply type with the intraply 
construction being intermediate between the two. The load-time curves and frac-
tured composite for Type 3-UARL are shown in Figs. 21 and 22. 
2.2.2.2 Impact Strength vs Hybrid Fiber Composite Modulus 
An important consideration in the evaluation of hybrid fiber combinations 
for structural parts is the x'elationship of impact strength to composite bending 
stiffness or modulus. A minimum of 131 GN/m2 (19 x 106 psi) flexural modulus 
is one criteria to be used in selecting composites for further evaluation in 
Tasks III and IV of this study. The correlation of total impact strength with 
flexural modulus for the hybrid composites tested to date is graphically illus-
trated in Figs. 23-26 for each hybrid fiber combination. In all cases 3-point 
moduli were used. 
2.2.2.2.1 m~S/S-Glass Composites 
With the ID~S/S-glass composites, Fig. 23, several combinations provide 
sufficient moduli wtth some improvement in impact strength. It is clear, however, 
the best compromise of impact and mechanical properties is provided by the intra-
ply UARL composit.e (side-by-side tow) containing 25 v/o S-glass. It is interesting 
to note that the DARL type intraply systems fallon a line between the pure EMS 
and S-glass laminates. In contrast the core-shell laminates, although giving a 
line having a similar slope, are below (left of) that of the nonhybridized systems. 
This is undoubtedly due to the effect of the 101"er modulus fiber being on the 
outside of the laminate where the bending stresses are maximized. The interply 
and dispersed fiber Heltra intraply do not lie on the same slope as the aboVe two 
types and it appears initial shear failure in the liMS graphite is the controlling 
factor in these composites. 
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UARL No. 
NAS-13 
NAS-14 
NAS-26A 
NAS...23A 
NAS-78 
NAS...5A 
NAS.l.A 
Composition 
Type 
12 
12 
l6 
16 
3-UARL 
Table XII 
Charpy Impact Loads of AS/Kevlar 49 III Epoxy Laminates 
Fiber Charpy Impact 
Ratio Strength 
v/o p. ~ Pmax (experimental) (actual) Newtons 1lbs ) Newtons (lbs) Joules (ft-lbs) 
AS-92 3,520 (800) 9,780 (2200) 29.4 (21) 
Kevlar-8 
As-69.7 3,080 (700) 4,448 (1000) 32.2 (24) 
Kevlar-30.3 
AS-90.9 10,450 (2350) 10,450 (2350) 32.2 (23) 
Kevlar-9.1 
As-65.5 (2500) 14,000 (3200) 35 (25) 
Kevlar-37.5 
AS-87.3 5,350 (1200) 5,350 (1200) 26.6 (19) 
Kev1ar-12.7 
Kev1ar 3,120 (710) 3,720 (845) 35 (25) 
AS 11,580 (2600) 11,580 (2600) 24.5 (17.5) 
FIG. 23 
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2.2.2.2.2 HMS/Kevlar 49 Composites 
Al,l configurations tested with the HMS/Kevlar 49 fiber combination, Fig. 24, 
resulted in only slight improvement in impact strength. The modulus of the com-
posites was the only real variable from 10 to 73 v/o Kevlar 49, irrespective of 
configuration type. The Heltra dispersed ;f'iber composite (50 v/o Kevlar 49), 
because of lower fiber content, gave the same results as the corresponding corel 
shell type and both had much lower modulus than the interply composite. Normal-
ized to 60 vlo fiber, the modulus of the Heltra composite would be 17.2 x 10 6 
psi, slightly lower than the corresponding interply laminate. The shear strength 
of both ill4S and Kevlar composites being relatively low and similar, and if shear 
failure is the primary fracture mode with the thick Charpy type specimen, little 
effect on impact properties are to be expected. 
2.2.2.2.3 AS/S-Glass and AS/Kevlar 49 Composites 
The AS S-glass, Fig. 25, laminates all resulted in moduli less than 131 
GN /m 2 (19 x 10 6 psi) but the interply type were at the same level as all AS 
graphite. The interply configuration while providing no improvement in impact 
strength particularly at the 20 v/o S-glass level compared to core/shell does 
result in higher flexural ~odulus at the two glass fiber contents tested. On 
this basis, interply configuration would be preferred over core/shell. The large 
percentage improvement in Charpy impact strength over the pure AS graphite 
achieved by the intraply system is noteworthy. This is discussed further below. 
AS-Kevlar 49 interply combinations, Fig. 26, resulted in composites having 
moduli at or slightly below 131 GN/m2 while the core/shell configurations tested 
are definitely inferior. Impact levels of the 30 v/o Kevlar 49 composites were 
the same. Clearly, S-glass provides more improvement in impact strength than 
Kevlar 49 for AS graphite systems with minor changes in modulus. 
It is interesting to note th~t when hybridizing AS graphite with either 
S-glass or Kevlar 49 the inter and intraply composites give impact/modulus prop-
erties vhich lie above the line connecting the two nonhybridized composites 
which is contrary to the effect found with ill4S graphite. This is presumably 
related to the higher strain capability of AS compared to EMS Which would allow 
the straining of the hybrid fiber to a greater degree during impact thereby 
providing a greater energy absorption. The S-glass being capable of straining 
to a higher degree than Kevlar 49, coupled with a higher flexural strength, would 
contribute to a higher fracture energy than can be achieved by Kevlar 49. This 
is illustrated by compar:ing the percentage improvement in Charpy impact strength 
for each of the 10 vlo interply type composites as compared to nonhybridized AS 
or ill'IS graphite. These data are listed below: 
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Composite 'l';u?ea 
AS/S-glass 
AS/Kevlar 49 
HMS/S-glass 
HMS/Kevlar 49 
aInterply - 10 v/o hybrid fiber 
% Improvement in Charpy Impact Strength 
over Nonhybridized Graphite 
112 
31 
o 
o 
A somewhat modified result is obtained if a similar comparison is made with 
the interply and intraply composites at the 20-30 v/o hybrid fiber level. These 
data are tabulated below: 
Composite Type 
(v/o Hybrid Fiber) 
intraply AS/S-glass (25) 
interply AS/S-glass (20) 
intraply AS/Kevlar 49 (13) 
interply AS/Kevlar 49 (30) 
interply HMS/S-glass (25) 
intraply !mIDIS-glass (25) 
interply HMS/Kevlar 49 (50) 
intraply HMS/Kevlar 49 (50) 
% Improvement in Charpy Impact Strength 
over Nonhybridized Graphite 
134.0 
100.0 
18.7 
50.0 
50.0 
104 .• 0 
12.5 
12.5 
The effect of varying amounts of hybrid fiber on the impact capabilities 
of the high and low modulus graphite fibers is readily apparent. The BlJIS requires 
a considerably higher percentage of hybrid fiber to produce any substantial 
improvements in impact than does the AS graphite with the exception of the S-glass 
intraply (tow-by-tow) construction. 
2.2.2.3 Impact Energies vs Composite Modulus 
In addition to . he Charpy impact strength and load capabilities of these 
reinforced composites the energies associated with the fracture mechanism are 
also of importance in determining the overall impact ca~abilities of a given 
system. The following curves illustrated the approach used to calculate the 
energies from the load-time traces. 
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The load and energy factors involved are: 
load 
(lbs) 
Time 
Pi = load required to initiate fracture 
::: maximwn load 
= energy of fracture initiation 
= energy of stable crack propagation 
= energy of unstable crack propagation 
= total impact energy. 
In some cases Ei and Ep will be the same, for example, as in the following curve. 
load 
(lbs) 
Time (ll sec) 
Of particular importance is the energy of stable crack propagation, Ep , 
which is a reflection of the amount of energy a given specimen can absorb and 
still retain load carrying capability even though crack initiation may have 
occurrp.d. In some cases Ei + Ep should be used to predict the energy capability 
prior to catastrophic failure. Tables X.J;II-XVI list the calculated energies for 
each type of reinforcement. The following equation was used in the calculation: 
area under load-time curve x load/division x 
deflection/division = E, ft-lbs 
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~ Table XIII 
Impact Energies o~ HMS/S-Glass Composites 
Fiber Charpy 
Ratio Impact Strength Ei Ep Ell ET 
Composition v/o (experimental) Ei + Ep 
UARL No. Type (actual) Joules (:ft-lbs) (~t-lbs) 
NAS-9 13 HMS-54.6 28 (20) 0.685 (0.49) 4.56 (3.26) 20.7 (14.8) 25.9 (18.5) 3.8 
s-45.7 
NAS-I0 13 HMS-76.4 25.2 (18) 0.578 (0.413) 7.5 (5.36) 28.3 (20.2) 36.4 (26) 5.8 
S-23.6 
NAS-15A 13 HMS-89.6 16.8 (12) 0.578 (0.413) 7.5 (5.36) 16.6 (11.9) 24.8 (17.7) 5.8 
0\ s-10.4 
0 
NAS-18 17 HMS-48.7 44.8 (32) 12.1 (8.64) 26 (18.6) 32.4 (23.2) 70.5 (50.4) 17.2 
S-51.3 
NAS-16A 17 HMS-72 22.4 (16) 2.9 (2.07) 5.17 (3.70) 24.2 (17.3) 32.3 (23.1) 5.8 
s-28 
NAS-24 17 HMS-86.7 12.6 (9) 0.91 (0.65) 8.02 (5.73) 11.6 (8.3) 20.6 (14.7) 6.4 
S-13.3 
NAS-36 2-UARL HMS-73.5 34.3 (.24.5) 3.46 (2.47) 8.64 (6.17) 26.6 (19.0) 38.7 (27.6) 8.6 
s-26.5 
NAS-36A 2-DARL HM8-28.8 54.6 (39) 2.83 (2.02) 10.3 (7.33) 41.5 (29.7) 54.5 (39) 9.3 
8-71.2 
, , 
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Table XIII (Cont'd) 
Fiber Charpy 
Ratio Impact Strength Ei E Ell ~ 
Composition vlo (experimental) p Ei + Ep 
DARL No. Type ( actual) Joules (ft-lbs) (ft-lbs) 
HAS-36B 2-DARL HNS-33.2 (36) 3.29 (2.35) 11.2 (B.O) 33.6 (24) 47.6 (3~) 10.4 
s-66.B 
l'J'AS-47B 2-Heltra HNS-40 3B.6 (27.5) 7.55 (5.4) 6.16 (4.4) 16.7 (11.9) 30.4 (21.7) 9.B 
s-60 
NAS-47C 2-Heltra HNS-34.4 (24) 2.34 (1.67) 3.76 (2.69) 25.2 (18) 30.8 (22) 4.4 
s-65.6 
0\ NAS-47D 2-Heltra HIvlS-64 (20.5) 2.83 (2.02) 2.81 (2.01) 24.1 (17.2) 29.7 (21.2) 4.0 
f-' S-36 
NAS-55 20a-l HMS-85.2 25.2 (18) 1.4 (1.0) 7.45 (5.33) 4.34 (3.1) 13~2 (9.4) 6.3 
S-14.8 
NAS-54 20a-2 H.MS-96.8 18.2 (13) 0.476 (0.34) 4.67 (3.34) 10.6 (7.6) 15.8 (11.3) 3.7 
S-3.2 
NAS-58 20a-3 HMs-70 15.4 (11) 2.31 (0.65) 9.56 (6.84) 11.5 (8.2) 22 (15.7) 7.5 
S-30 
NAS-61 HMS 16.8 (12) 0.686 (0.49) 13.4 (9.6) 6.85 (4.9) 14.1 (10.1) 10.1 
NAS_3A S-glass 73.5 (52.5) 5.16 (3.69) 21.6 (15.4) 46.2 (33) 72.8 (52) 19.1 
I 
~ 
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Table XIV 
Impact Energies of HMS/Kev1ar 49 III Composites 
Fiber Charpy 
Ratio Impact Strength Ei Ep E~ ET 
Composition v/o (experimental) Ei + Ep 
UAHL No. Type (actual) Joules (ft-lbs) (ft-lbs) 
---
NAS-12A 14 HMS-92.5 l5.4 (11) 2.31 (1.65) 2.88 (2.06) 23.10 (16.5) 28.28 (20.2) 3.7l 
Kevlar-1.5 
NAS-llA 14 HMS-58.2 18.9 (13.5) 1.15 (0.825) 1.52 (5.31) 20.12 (14.8) 29.40 (21.0) 6.l9 
Kevlar-41. 8 
IiA8-28 18 HMS-89.1 13.6 (9.75) 1.61 (1.15) 8.19 (5.85) 9.80 (7.0) 19.60 (14) 7.0 
: .0'\ Kevlar-l0.9 
'I\) 
NAS-18 18 HMS-57.7 20 (14~2) 1.59 (1.14) 7.08 (5.06) 13.72 (9.8) 22.40 (16) 6.2 
Kevlar-42.3 
NAS_46 4-UARL HMS-51. 7 18.9 (13.5) 2.88 (2.06) 2.89 (2.07) 24.92 (17.8) 30.66 (21.9) 4.13 
Kevlar-48.3 
NAS-49 4-Heltra RMS-27.4 20.3 (14.5) 1.72 (1.23) 6.30 (4.5) 16.24 (11.6) 24.22 (17.3) 5·7 
Kevlar-72.6 
NAS-49A 4-Heltra HMS-4B.4 16.8 (12) 1.93 (1.38) 3.20 (2.29) 6.42 (4.59) 11.56 (B.26) 4.1 
Kevlar-51.6 
NAS_63 EMS (12) .686 (0.49) 13.4 (9.6) 6.86 (4.9) 14.14 (10.1) 10.0 
NAS-5A Kev1ar (25) 2.80 (2.0) 7.98 (5.1) 14.56 (10.4) 25.34 (18.1) 7.1 
t ~ i> 
~, 
"" 
8J 
~ r-' 
Fiber 
Ratio 
Composition v/o 
UARL No. Type (actual) 
NAS-6 11 As-B9.1 
S-10.9 
NAS-Be 11 AS-79.B 
S-20.2 
NAS-17A 15 As-Bo.2 
8-19.8 
NAS-20A 15 AS-B5 
8-15 
NAS-35 19a-2 AS/liM-57. a 
S-3.5 
NAS-34 19a-1 AS/liM-55.0 
S-4.3 
NAS-76 1-UARL AS-75 
8-25 
NAS-lA AS 
NAS-3A 8-g1ass 
..,,' !'f)l.,Mt'IIM* N'e Lfl1"*_t,,,,~~~~,~,,,,"l<q'''''''''I-\~.w;,;,,",,,; ..... ,!-,,,,...:;,~, '<~'~, 
Table XV 
Impact Energies of AS/S-Glass Composites 
Charpy 
Impact Strength Ei Ep Ep ET 
(experimental) Ei + ~ 
Joules (ft-lbs) (ft-lbs) 
42.00 (30) 1.14 (0.82) 13.7 (9.B) 39.76 (2B.4) 59.60 (39) 10.6 
44.Bo (32) 4.57 (3.27) 7.0 (5.0) 34.16 (24.4) 45.7B (32.7) 8.3 
(11.5) (12.9) (14.a) 
46.20 (33) B.B5 {0.33) 10.03 (7.17) 26.04 (lB.6) 36.54 (26.1) 7.5 
30.80 (22) 2.98 (2.13) 2.73 (1.95) 14.84 (10.6) 20.58 (14.7) 4.1 
1/'.50 (12.5) 1.40 (1.0) 3.29 (2.35) 11.06 (7.9) 15.82 (11.3) 3.4 
19.60 (14) 2.29 (1.64) 7.0 (5.0) 8.6B (6.2) 22.82 (16.3) 6.6 
52.5 (37.5) 4.34 (3.1) (0) 36 (25.7) 40.3 (28.8) 3.1 
24.5 (17.5) 6.10 (4.36) 0 (0) 21.00 (15) 26.60 (19) 4.36 
73.50 (52.5) 5.16 (3.69) 21.56 (15.4) 46.20 (33) 72.80 (52) 19.1 
., l'.; 

In most instances the total calculated energy, ET, agreed well with that 
obtained experimentally, particularly those from the latter part of Task I due 
to continued refinement of the instrumented Charpy apparatus. Ei' the energy 
of fracture initiation, however, is somewhat questionable since moduli calCUlated 
from the Charpy curves did not agree with statically measured values. The main 
difficulty arises in the assignment of a point on the load-time trace where 
fracture actually initiates. In most instances where this is not obvious, a 
change in slope of the curve was designated as the initiation of fracture. 
2.2.2.3.1 HMS/S-Glass Composites 
The highest Ep value obtained for the HMS/S-glass systems, Table XI!I, which 
met the minimum modulus requirements, 131 GN/m2 and had an impact strength greater 
than 20 ft-lbs was with the side-by-side tow intraply type (NAS-37). In decreasing 
order, were the interply (NAB-30), core/shell (uAs-43) and the dispersed tow 
intraply (NAB-48c) configurations. The latter type showed ,an Ep value only 1/3 
that of the NAS-37 intraply. These results, as did the Pmax values, reflect the 
importance of shear deflection mechanisms in determining the impact characteristics 
of a given system. 
2.2.2.3.2 HMS/Kevlar 49 Composites 
None of the composites in the HMS/Kevlar 49 hybrid fiber combination, Table 
XIV, meet the minimum Charpy impact strength of 20 ft-lbs (experimental value). 
It should be noted that in this series the agreement of ET (calculated) with the 
measured value is not as consistent as were the glass modified composites. In 
addition, the Ep values of all the composites were lower than the best HMS/S-glass 
system which indicates that with EMS graphite S-glass is the preferred hybridizing 
fiber. 
2.2.2.3.3 AS/S-Glass Composites 
Applying the same minimum modulus criteria to the AS/S-glass systems, Table 
XV, would eliminate all composites of this hybrid combination from further con-
sideration. It is felt, however, that because of the high use potential of the 
low modulus AS type graphite, those composites which maintain the same modulus 
level as homogeneous AS should be considered for further evaluation. This would 
allow consideration of the AB/S-glass interply and intraply type composites at 
the 10 vlo and 25 vlo level respectively of glass fiber. These laminates have 
demonstrated some bl' the highest impact strength improvements of the hybrid 
systems tested to date. If the modulus requirements cannot be met, a possible 
alternative would be the addition of a thin shell of T-75 or EMS graphite to the 
AS/glass inter or intraply composites sufficient to increase the modulus to meet 
the requirements without loss of the desired impact capabilities. 
2.2.2.3.4 AS/PRD Composites 
Consideration of AS /PRD combinations, Table XVI, is limi tBd to the inte
rply 
type based on Ep energy calculations. Of the tvro levels of hybrid fibe
r tested 
only the 10 v/o NAS-13 meets the minimum modulus requirements. It shou
ld be 
noted that the En of this composite is only half that of the corresponding S-
glass composite 1NAS-6) and the total impact energy is lower. Results i'or the 
intraply type 3-UARL, HAS-78, were lower than expected compared to the 
improved 
results obtained with the intraply ASjS-glass combination. 
Impact properties were similar to the interply type. It was of intere
st 
to correlate initial (Ei) and propagation (~) impact energies with flexural 
modulus to determine if any differences in impact behavior prior to cat
astrophic 
failure changed the ranking of the hybrid laminates as comp,ared to tota
l Charpy 
impact strength. Graphs or (Ei + ~) vs flexural modulus are shown in Figs. 
27-30. Although there were some minor shifts in composite behavior, in
 general, 
the same relationship of impact energy to flexural modulusW'as found us
ing the 
Ei + Ep parameter. This suggests that for the Charpy test using standa
rd size 
specimens, total impact energy can be us~d efficiently to correlate imp
act 
behavior with other mechanical properties. 
2.2.3 Thin Charpy Specimen Tests 
Although the instrumented Charpy test USing standard size 0.394 in. thic
k 
specimens is a valuable screening tool for showing differences in comp
osite impact 
characteristics, the results from such tests have shown inconsistent c
orrelation 
at UARL with impact data obtained using ballistic impact tests. Since 
our resul-ts 
with the siiandard Charpy specimens are shear limited, laminate types m
ight be 
selected which would perform unstaisfactorily under ballistic impact. 
The latter 
more closely simulates impact in actual use conditions. In addition, i
t is be-
lieved the shear stress to bending stress ratio of the thin Charpy spec
imen will 
be in better agreement with those encountered in the ballistic impact t
est. Because 
of this fact and previously indicated results using thin Charpy specime
ns, a series 
of Charpy tests were run on the intraply type composites made by the H
eltra dis-
persion process and the tJARL tow-by-tow construction to determine (l) the effect 
of specimen thickness on impact failure mode and (2) what correlation, if any, 
exists between slow bend test data and thin Charpy impa.ct test results.
 The 
impact data obtained are listed in Table XVII. 
Both shear and bending stresses i{ere calculated from the Pi and Prr.ax loads 
respectively obtained in the Charpy test and compared to static three -
point flex-
ural test dat~ on the ~ame conposites. These results are shown in Table XV
III 
together with impact data obtained uSing the corresponding standard Ch
arpy specimens. 
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Table XVIII 
Charpy Impact Test Thickness Variations 
Thin S~ecimen Data Thick Specimen Data 
Bending Stress Shear Impact Impact 
ksi Stress, psi Energy/Area Pi(lbs) Pmax:(lbs) Strength 
UARL No. Calcda se.:.. (c~cd)a ft-lbs/in.2 (ft-lbs) 
NAS-47C 112 126 2260 76.4 650 800 24 
-3613 119 143 2660 120 910 1040 39 
-49A 111.8 105.5 2510 34 623 710 12 
-46 127 98 3980 41.5 800 1350 13.5 
-471> 180.5 159.5 3890 54.5 640 660 20.5 
aStandard isotropic homogeneous beam equations used for calculating stresses 
" 
Impact 
Energy/Area 
ft-lbs/in. 2 
153.6 
254 
79 
88.8 
134.5 
t' --" .• ,", q"'";",,I"~""- % 
Comparison of the total impact strengths obtained with the thin and thick 
specimens gives the same relative ranking for the composites. However, both the 
calculated and experimental bending stresses and tlle calculated shear stress give 
a different ranking order. The agreement between the experimental and calculated 
bending stresses, however, is reasonably good. The differences may be due to the 
fact that some specimens failed in shear rather than tension. 
The effect of specimen thickness on Charpy impact strength for these intraply 
hybrid composites can be seen in Fig. 31 which correlates specimen thiclmess with 
Charpy impact energy per unit area. The response of S-glass reinforcement com-
pared to Kevlar 49 with the two different types of intraply construction is readily 
seen. With Kevlar 49 (PRD) there is only a minor increase in impact strength with 
increasing thickness with no difference in response for the two types of construc-
tion. With S-glass, however, the tow-by-tow system results in considerable increase 
in impact strength as thickness increases compared to the Heltra type dispersion. 
Comparison of the slopes of the lines }".t'ovides an indication of these differences 
as seen below. 
ComI;osite Type 
m~S/S-glass, 2 UARL 
RMS/S-glass, 2-Heltra 
HMS/Kevlar 49, 4-UA..l'tL } 
4-Heltra 
Slope 
ft-lbs/in. 3 
233 
158 
Slope 
Normalized 
2.97 
1.48 
1 
These differences are undoubtedly related to the different shear-bending 
stress ratios in the specimens of varying thickness. Further testing ",as done 
in Task II using additional hybrid fiber combinations in order to better define 
the relationship between test specimen geometry and energy absorption. 
To gain a better understanding of thickness effects analysis of the data 
was carried out using the concepts discussed by Mullin and Knoell (Ref. 5). 
Shear stress and fleXllral stress interaction diagrams were constructed for uni-
directional HMS/Kevlar 49 III intraply composites UAs-46 and 49A. These cu:rves, 
shown in Figs. 32 and 33, plot the maximum shear and bending stresses, respec-
tively, present in a composite beam as a function of span-to-depth ratio (L/h) 
based on measured values of shear strength, TO, and flexural strength, cro. In 
beth cases the inflection point in the curve is the maximum L/h at which failure 
should occur in interlaminar shear. Beyond that, failure should be controlled by 
flexural properties. Both curves were calculated from static properties. 
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The shear stress interaction diagram in Fig. 32 indicates that a span-to-
depth ratio of 8 is the maximum for shear failure. The data points represent 
shear stresses calculated from both static and impact tests 'which were conducted 
on specimens of various thickness. The shear stresses in the impact tests v·ere 
calculated from Pi values given in the above-referenced table. The agreement 
between the curve and the experimental points was excellent over the entire range 
of Llh investigated. The results also indicate that there was no effect of strain 
rate since the stress calculated from the static and impact tests were essentially 
identical. 
The flexural stress interaction diagram in Fig. 33 also showed good agreement 
between the calculated curve and the experimental stresses with the possible ex-
ception of the tests conducted at an Llh of 14. With the exception of those tests, 
the data again indicated a lack of strain rate sensitivity. 
Taken together these curves clearly point out the importance of span-to-
depth ratio in the pendulum impact test. The standard Charpy test with an L/h = 4 
is controlled by shear failure. It has been experimentally shown that at tlh = 14 
and higher, behavior is controlled by flexural strength. Calculations indicatl~ 
that for this material flexural properties will continue to control failure dOvTn 
to Llh = 8. Of course, the response of materials having different TO and 00 would 
be different. 
Similar diagrams have been constructed for the angle-ply composites in Task II. 
It is believed this analysis points out the danger in using standard Charpy impact 
data if the intended application is to involve loading at high Llh ratios. 
2.2.4 Analytical Calculations 
The flexural moduli of the composites tested are in some cases lower than 
would be predicted on the basis of rule-of-mixtures calculations using fiber ten-
sile moduli. To facilitate calculation of the flexural modulus of hybrid com-
posites a UARL computer program is being applied to calculate bending stiffness 
for hybrid laminates using individual ply moduli, ply thickness and stacking 
sequence. Table XIX lists a comparison of the predicted and experimentally 
measured bending moduli and failure loads for a series of interply and core-shell 
type hybride laminates. The agreement between predicted and measured moduli was 
reasonably good. The predicted values generally fell within the experimental 
scatter of the measurements. Several of the failure' loads were not very well 
predicted however. Furthermore, ~he predicted failure mode was wrong for several 
of the compositles. In particular, many of the flexural specimens failed partially 
in shear. Based on the measured short beam shear strengths which were input as 
failure criteria, the calculations indicated that the maximum shear stresses 
77 
J Table XIX 
Predicted and Experimental Bending Properties 
Fibers Construction Predicted E Heasured E Predicted Failure Measured Failure 
(msi) (msi) Load/Mode Load/Mode 
8o-AS/20-g1ass inte:r:ply 16.6 15.8 176/tension 150/tension 
90-HM/10-glass interply 27.5 27.2 120/tension 92/ camp., shear 
75-Ht'1/ 25-g1as s interply 25.6 28.7 98/tension 144!comp., shear 
80-AS!20-glass core-shell 13.6 12.0 l74!tension l77/tension, shear 
-:) 
90.."HM/IO-glass core-shell 22.4 23.0 lO8/tension l13!comp., shear 
CO 
75-BM!25-glass core-shell 17.2 16.0 84/tension l27/comp., shear 
50-Rt-1i50-glass core-shell 11.0 10.6 73/tension 103!comp., shear 
present in the bC2lIls were much too low to cause failure in that mod~. As a 1'€.-8111t. 
of this discrepancy the siJ.ort beam shear test is currently being analY2ed to 
determine the validity of the calculated shear strength:::; which were use:i as failure 
cri teria in the bending analysis. 
2.2.5 Hybrid Fiber Content vs Material Costs 
Although cost is not a criteria to be used in the current study it was of 
interest to determine the effect of hybridization on this important parameter or 
total fiber cost for future reference. These comparisons are illustrated graphic-
ally in Figs. 34-37 using flexural modulus as a mechanical property parameter. 
In order to analyze these data on the basis of costs it is necessary to 
establish some design criteria, then compare the COE!ts of the hybrids which mef.::t 
the requirements. An example of this procedure is illustrated by Ta.bl(i! XX whicb 
lists all the hybrids which had a flexural modulus of 17.5 x 106 psi Or ereater 
along with the fiber types, construction, flexural strength, and fiber cost 
information. Also listed for comparison are similar properties of AS and HHS 
composites. l"iber cost per lb was calculated by I'lultiplying the fiber rati() times 
the fiber cost. Fiber cost per in. 3 of composite "Tas obtained by multiplyinr.; fiber 
cost per pound times composite density. The modulus criterion of :17.5 x 106 psi 
was selected as being a level which could be readily achieved with 3inBle com-
ponent AS graphite-epoxy composites. It is clear that several hybrid systems were 
capable of producing essentially the same modulus as AS composites "dth lower 
overall fiber costs per pound. The AS/25 percent glass intraply composite was 
25 percent lmfer in fiber cost than the AS composite, and had essentially the same 
flexural strength. The only HMS hybrid which had a lower cost per 1b than the AS 
material was the HMS-55/G1ass-45 interp1y which had a lower flexural strength. 
Thus, the usefulness of that system might depend on whether strength "ras of criti4~al 
impox'tance for the particular application. t.1any of the Hil;S hybrids which cost rno!"'e 
per pound than AS also had higher ll'!oduli, and if a struC!tUrB was stiffnesG limited 
it might be possible to achieve a more efficient design or use thinner sections 
than if AS was the reinforcing :fiber. 
The advantage of Kevlar 1+9 (PRD) as a hydridizing fiber is brought out in 
the column showing fiber costs per cubic inch of ce;mposite. Due to the low den-
sity of Kevlar 49 versus that of S-c;lass, it becomes a much mOre attractive can-
didate if weight is an important. consideration. Another possible advantage for 
Kevl81.· 49 in comparing it with S-glass in hybrids is the known degradatl on of 
glass by moisture. The manufacturer of Kevlar 49 (DuPont) claims much better 
moisture resistance compared to glass. 
It is interesting to note that none .of the core-shell constructions net 
the modulus requirement, although as mentioned previously, reversing the rein-
forcing fibers in the COl'fi) and shell would have changed the situation. 
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Table XX 
Hybrid Composite Systems Faving Greater Than 17.5 x 106 psi 
Flexural Modulus and Costing Less Than $70.00/1b 
Flexural Flexural 
Fibers Modulu'3 Strength Fiber Cost/lb Fiber Cost/ 
(Ratio" v/o) Construction msi ksi . 3 C ·t 
--
-
J.n. omposl. e 
AS-75 intr:l.ply 18.5 270 $42.00 $2.66 
S-glass-25 
AS-90 interp1y 11.8 245 49.55 2.94 
S-glass-10 
HMS-55 interply 17.5 200 51108 3.36 
S-glass-45 
AS-8, intrapJ.y 18.3 290 51.50 2.90 
Kevlar-15 
AS-85 interply 18,0 225 51.50 2.88 
Kevlar-15 
HMS-65 intraply 22.5 171 59.73 3.94 
S-glass-35 
HMs··60 interply 17.8 1~5 64.00 3.54 
Kevlar-40 
HMS-15 intraply 20.6 171 68.38 4.45 
S-glass-25 
ID-1S-'T5 interply 28.7 190 68.38 4.3~ 
S~glass-25 
Af5 18.1 215 55.00 3.16 
HMS 27.5 175 90.00 5.33 
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2.2.6 Conclusions from Task I Results 
S-glass is, in general, a better reinforcement than Kevlar 49 for strength 
and pendulum impact properties. Modulus restrictions may limit to some extent 
AS/S-glass combinations. 
vii th JllI1S laminates interply hybrids result in the highest moduli for a 
given hybrid system while in AS laminates intraply hybrids are superior. 
Core-shell hybrids, with secondary fibers in the shell, suffer large bending 
modulus reductions as the amount of hybridizing fiber increases. 
Addition of S-glass to HMS graphite causes no loss in flexural strength 
regardless of ply construction; while with AS graphite flexural strength de-
creases with increasing glass content except for intraply (tow-by-tow) which 
gave strengths equivalent to homogeneous AS composites. 
Addi tion of Kevlar 49 to m~s graphite causes large decreases in flexural 
strength above 10 vlo independent of ply construction. Similar results with 
AS are obtained except with the intraply tow-by-tow construction which like 
S-glass resulted in no decrease in flexural strength compared to AS graphite. 
Hybrid composite shear strength is generally limited by the weakest link. 
In intraply composites the tow-by-tow hybrid configuration is generally 
superior in pendulum impact behavior to the dispersed fiber type. 
Additions of Kevlar 49 to HMS graphite do not provide significant improve-
ments in impact regardless of ply construction. 
For pendulum impact tests (Charpy) using standard size specimens total 
impact energy (Et) rather than the more difficult to obtain initial fracture 
energy (Ei) and. crack propagation energy (Ep) can be used to correlate impact 
behavior with other mechanical properties. 
The instrumented pendulum impact test provides valuable information for 
.eyaluat1ng materials beyond that which can be obtained from standard tests 
'~~rticularlY with thin Charpy specimens. 
The sts"nda.rd pendulum impact test is shear limited. With thinner specimens 
the influence of shear on total impact appears to decrease. Bending stresses 
calculated from Pmax load obtained in the thin Charpy test correlate well with 
static three point flexural test results. 
:1 
In terms of fiber material costs the AS/S-glass (25 v/o) intraply composite 
was 25 percent lower than homogeneous AS while maintaining the same flexural and. 
shear strengths and flexural modulus with considerably improved impact resistance. 
These results strongly indicate the need for further investigation of the tow-by-
tow AS/S-glass composition to determine (1) the level of hybrid fiber which can 
be added before a decrease in flexural strength and modulus occurs, (2) the 
optimum impact strength level which can be reached, and (3) an estimate of the 
minimum fiber cost which can be obtained. 
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III. TASK II - IMPACT STRENGTH EVALUATION OF ANGLEPLY AND THIN MULTI-FIBER 
EPOXY RESIN COMPOSITE LAMINATES 
The data analysis of Task I has shown that results with the standard Charpy 
specimens are shear limited, and if laminate types were selected on this basis 
alone they might preform unsatisfactorily in ballistic impact tests and, ulti-
mately in component evaluation. In addition, results from Task I indicated 
that bending stresses calculated from the Pmax load obtained in thin specimen 
Charpy tests correlate well with the static three point flexural test results. 
On the basis of total energy absorption the two tests (thin and thick Charpy) 
give the same order of ranking for the composites tested. However, on the basis 
of maximum stresses achieved before failure the rankings were different. In 
fact the poorest danking composite in the thick specimen test became the best 
composite in the thin specimen test. Since t):1e primary objective of the program 
is to provide multi-fiber composites of maximum impact resistance, it was felt 
that it was importa~t to gain a better understanding of the correlation between 
pendulum impact strength testing and the ballistic testing before laminate hybrid 
types are selected for extensive evaluation. 
The primary objective of Task II was to determine the relationship, if any, 
between pendulum and ballistic impact tests using selected angle-ply hybrid com-
posite types. In addition, the relationship between impact specimen configuration, 
both angle-ply and unidirectional, with other composite mechanical properties was 
investigated. 
3.1 Thin Angle-Ply Composites 
A series of laminates were fabricated using the following angle-ply 
configurations: 
(A) +40, 0, +10, 0, -10, -10, 0, +10, 0, +40 
(B) +22, 0, +22, 0, -22, -22, 0, +22, 0 +22 , 
(C) +45, 0, +45, 0, -45, -45, 0, +45, 0, ~45 
The first angle-ply has been shown by Hanson and Chamis (Ref. 6) to be an 
effective design for high tip speed compressor blades, the second has been em-
ployed by General Electric and the third corresponds to the angle-ply configuration 
used by Pratt & Whitney Aircraft in a current NASA contract (Ref. 7). Twelve ply 
laminates were fabricated with each angle-ply configuration using the following 
fiber combinations and ERLA-4617 epoxy resin: 
Type 2-DARLIntraply-HMS(75)!S-glass(25) 
Type l-UARL Intraply-AS(80)/S-glass(20) 
Type 12-Interply-AS(90)/Kevlar 49(10) 
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T11ese composition types were selected on the basis of good overall mechanical 
properties and variation of hybrid. fiber reinforcement and composite construction. 
In the Type 12 interply laminate Kevlar 49 was used in the outermost 00 plies. 
T11e physical properties for each fabricated laminate are listed in Table XXI. 
Specimens for flexural strength and modulus as well as instrumented thin Charpy 
tests were cut from a 3.82 cm (1.5 in.) x 12.7 cm (5.0 in.) panel. Fabricating 
conditions were the same as those described in the Appendix. 
The m~/S-glass Type 2-UARL laminates were fabricated using two different 
levels of glass content. This was achieved by use of 20 end and 12 end glass 
roving as indicated. The higher per ply thickness obtained in the interply Asl 
Kevlar 49 laminates is primarily due to the Kevlar 49. For the ballistic speci-
mens the Kevlar prepreg was spread to help reduce the overall composite thickness. 
As noted, one composite having +300 instead of +400 plys was inadvertently 
fabricated. 
3.1.1 Static Properties of Thin Angle-Ply Composites 
The flexural strength and modulus of the composites made using the three 
angle-ply configurations and three hybrid fiber combinations are listed in 
Table XXII. Comparison of the flexural strengths and modulus of the two HMS/S-glass 
systems (NASX-2 to 4 = 37-38 vlo glass and NASX-ll to 13 = 26 vlo glass) shows 
that the effect of higher glass content is mainly reflected in the moduli of the 
two sets of composites, with the lower glass content resulting in greater stiff-
ness, particularly for the ~40,0,10 and ~22,0 configurations while the two +45,0 
laminates gave essentially the same modulus. This latter result is undoubtedly 
due to the low modulus of the +45,0 configuration which resulted in the masking 
of any hybrid fiber concentration effect. The flexural strengths of the corres-
ponding laminates were nearly the same showing no marked change with varying 
glass content. It is interesting to note that changing the 40° angle-plies in 
HASX-2 to 300 (NASX-l) resulted. in a modulus 1. 5 times greater for the latter 
angle-ply with only a slight change in flexural strength. Comparison of the 
flexural strengths of composites NASX-5 through NABX-13 s~ows that with the 
intraply composites the strength decreases in the order of +40,10,0 > +22,0 > 
+45,0 type angle-ply. The interply AS!Kevlar 49 laminate (composition 12) is 
slightly· different with +22,0 > ~40,10,0 > +45,0 angle-ply. 
The flexural modulus with all three angle-ply constructions irregardless of 
composition type or laminate construction decreases in the order of +22,0 > 
+40,10,0 > +45.,0 angle-ply. Of particular interest is the equivalent moduli 
-;btained with the l-UARL (AS/S-glass) and type 12 (AS/Kevlar 49) laminates. Al-
though the former is intraply and the latter interply it would be expected that 
the modulus of the type 12 composite should be considerably higher. It is 
hypothesized that the lower than expected modulus of the type 12 system is due 
to the contribution of the much lower shear modulus of Kevlar 49 vs S-glass. 
Shear deflection is not accounted for in the e9..uation used to calculate flexural 
modulus. 
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Table XXI (Cont'd) 
Composition Thickness Density 
UARL Ho. Type Angle-Ply mil/;El;Y: Ji.1 cc __ 
nASX-l1 2-UARLb A 6.35 1.73 
-12 " B 6.67 1.72 
-13 0 C 6.67 1.77 
aFabricated tow-by-tovT using Ferro S-glass 20 end roving 
b}j'ahd.ca.ted· tow-by-tow using Owens-Corning S-glass 12 end roving 
CA = +40,0,10; J3 =' +22,0; C = +45,0 
- ". - -
• 
.. 1" 
vlo 
vlo ResiA vlo Fiber vlo Void Fiber Ratio 
35.7 ill>1s-44.4 3.2 HMS-72.5 
s-16.7 S-27·5 
35·5 HMs-43.9 4.1 HMS-72.8 
s-16.5 S-27·2 
30.1 HMs-48.4 3.8 HMS-73.2 
8-17.7 s-26.8 
iI 
Table XXII 
Flexural Strength and Modulus of Angle-PlY Hybrid 
Fiber Epoxy Matrix Compositesa 
Flexural Flexural 
Composition Strength Modulus 
UARL No. Type_ An~le-Plyb GN/m2 Lksi) GN/m2 (psixl06 ) 
NASX-l 2-UARL 
-
c 0.47 (68.7) 69.6 (10.12) 
-2 " A 0.457 (66.3) 46.9 (6.81) 
-3 " B 0.49 (71. 05) 87.6 (12.71) 
-4 " C 0.39 (56.6) 46.7 (6.78) 
-5 l-UARL A 0.816 (118.5) 53.5 C7.75) 
-6 " B 0.745 (108) 84.8 (12,3) 
-7 " C 0.58 (84.1) 35.8 (5.19) 
-8 12 A 0.398 (57.7) 54.8 (7.95) 
-9 " B 0.43 (62.3) 85.1 (12.35) 
-10 " C 0.30 (43.5) 31.8 (4.4) 
-11 2-UARL A 0.51 (74) 57.5 (8.35) 
-12 " B 0.483 (70) 104 (15.1) 
-13 " C 0.358 (52) 45.6 (6.61) 
a Tests conducted at room temperature, SiD = 32/1, 3...;point loading. 
Duplicate tests. 
bA =+40,0,10; B = +22,0; C = :!:.45,O. 
CAngle-ply +30,0,+10,0,-10,0; 0,-10 ,0,+10 ,0,:!:.30 
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3.1.2 Dynamic Properties of Thin Angle-Ply Composites 
The Charpy impact loads and strengths for the thin composites are listed in 
Table XXIII. Data for both composites of each type are listed. For the three 
composite types tested the +40,0,10 angle-ply configuration resulted in the 
highest impact strength (ft-lbs/in. 2 ) with AS/S-glass (l-UARL) > AS/Kevlar 49 
(Type 12) > HMS/S-glass (2-UARL). With the first two types the ~22,0 angle-ply 
was nearly as effective in terms of impact while the latter t~~e (2-UARL) showed 
a substantial decrease in impact response in both the ±.,22,0 and ~45,0 configuration 
compared to the +40,0,10. 
In the Hl4S/S-g1ass containing the high glass content (NASX-2,3,4) the ~22,0 
configuration was superior and all angle-ply configurations were higher than the 
comparable lower glass content composites (NASX-ll,12,13) as would be predicted. 
vlith two exceptions the Pi and Pmax loads were identical indicating that 
the main failure mode was in flexure. Composites NASX-6 (AS/S-glass +22,0) and 
NASX-8 (AS/Kevlar 49 +40,0,10) showed indications of shear failure by a dei'inite 
Pi prior to reaching Pmax • These data are shown in Table XXIII. No positive 
explanation for this occurrence has been found. As mentioned previously, there 
is some degree of uncertainty associated with identification of Pi' With these 
angle-ply systems, however, it is clear that Pi and Pmax for the most part occur 
at the same load level which is contrary to the standard Charpy thick specimens. 
The relationship between static property and impact st:riength as affected by 
angle-ply is shown in Fig. 38 which plots flexural modulus VB the average impact 
energy in ft-lbs/unit area for each composite. In terms of modulus the +22,0 
angle-ply is superior while the +40,0,10 angle configuration results in the 
highest impact strengths. 
It is interesting to note that there is little variation in either modulus 
or impact energy between the HMS/S-glass (37 v/o), AS/Kevlar or AS/S-glass com-
posites using the ~22,0 configuration. For every angle-ply, however, the 
intraply AS/S-glass system appears to offer the best combination of modulus and 
impact energy. 
3.1. 3 Varying Thickness Angle-Ply Composites 
To gain a better understanding of the t~ffect of thickness on composite impact 
p;t:'operties and to aid in the correlation of pendull,llll impact vs ballistic impact, " 
a series of laminates of each composite type was fabricated using the.+22,0 
angle-ply configuration. Specimens of approximately 0.127, 0.254., 0.508, 0.90 
and 1.016 cm (0.50, 0.100, 0.200, 0.300 and 0.400 in.) thickness have been made ~ 
with the AS/S-glass, HMS/S-g1ass intraply and AS/Kevlar interply types. The 
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Table XXIII 
I~pact Data for Thin Angle-Ply Hybrid Fiber Epoxy Composites 
Pi = Pmax 
Composition 
VARL :lo. ~mea_~ ,ApJ!ke-Plyb Ue,ftons Nenons 
j.;ASX-1 2-UARL c 334 369 
-2 " A 320 426 
-3 II B 497 497 
-4 II c 426 426 
-5 l-UARL A 444 
-6 " B Pi 444 466 
Pmax 534 534 
-7 " c 400 444 
-8 12 A Pi 835 845 
Pmax 1200 1158 
-9 11 B 845 1022 
-10 " C 622 578 
-11 2-UARL fA. 311 311 
-:-12 \I B 267 249 
-13 It C 267 327 
~2-UARL = EtSjS-glass; 1-UrlRL '" AS/S-glass; 12 = AS/Kevlar 49 
.ok, ::0 :!:.40~0:,lQ; B "'!;.22,O; C "" +45,0 
C~'I.ngle-ply +30,0,+10,0,-10,0,0,-10,0,+10,0,+30 
~. -
(lbs) 
(75) 
(72) 
(112) 
(96) 
(104) 
(100) 
(120) 
(90) 
(188) 
(270) 
(190) 
(140) 
(70) 
(60) 
(60) 
Charpy Impact 
Strel~th 
(lbs) Joules (ft-lbs) 
(83) -/1.74 -/1.24) 
(96) 2.35/3.14 (1.68/2024) 
(112) 3.38/3.89 (2.42/2.78) 
(96) 2.62/1. 75 (1.87/1.25) 
(100) 3.52/3.16 (2.51/2.26) 
(105) 3.14/2.69 (2.24/1.92) 
(120) 
(100) 2.1/2.7 (1.50/1.93) 
(190) 5.22/5.0 (3.73/3.57) 
(260) 
(230) 4.76/5.14 (3.40/3.67) 
(130) 3.01/3.15 (2.15/2.25) 
(70) 
-/1.51 -/1.08) 
(56) 1.33/1.37 (0.95/0.98) 
(73.5) -11.595 -/1.14) 
:!..:.r,",'j' ."",,, .::iO.! .... ::::A.;~..t.~.,.='.;:'!.;.~;>.,'. .. .:.c~;.;~;; . ....:;..",~': ~. ''';~~ .. ~:~~: .. ~.":,;; .. , :. ~'"'''~~",~;,,,".:'''" ... : ..• ,' ~-!;~ ... ,~(.~:...: :,~ji~#"; ;~,;:1._::,:,,« .:: ' . 
... 
Impact Strength 
Per Unit Area 
J 9Jil.eE.i cm2 (ft-lbs/in2 ) 
8.1 (37.4) 
10.38/13.3 (47.8/61.3) 
13.5/15.04 (62.2/69.4) 
9.7/6.48 (44.7/29.9) 
18 .. 1/16.1 (83.4i74.2) 
15.8/13.55 (72.9/62.4) 
10.4/12;78 (48/58,8) 
14.75/13.95 (68/64.3) 
13.35/14.3 (61.5/66) 
9.15/9.86 (42.2/45·.5) 
-/12.4 -/57.2) 
6.6/6.9 (30.4/31.8) 
-/8.06 ( -/37.2) 
. __ ....... "'.'_H\.... '''''. .-,'~~ ......... -.:,~;..,4; ~l", ... ,"' ... _l,.,. .. oll'~;n., 
FIG. 38 
FLEXURAL MODULUS - PENDULUM IMPACT ENERGY IUNIT AREA OF ANGLE-PLY COMPOSITES 
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+22,0 angle-ply was chosen because it produced the highest modulus values. In 
addition, because of superior impact response, the AS/S-glass intraply type was 
also fabricated in the same thickness series using the +40,0,10 angle-ply. Three 
specimens were cut from a 3.81 cm (1.5 in.) x 6.03 cm (2 3/8 in.) block for each 
thickness level. Two were tested by instrumented Charpy and one in slow bend. 
The thickness and density of each thickness level is listed in Table XXIV as is 
the average Charpy impact energy and energy/unit area. 
Figure 39 illustrates graphically the relationship of thickness to Charpy 
impact strength (ft-lb/sq. in.). The AS/S-glass and F-MS/S-glass 1F2,0 laminates 
follow the same general trend of increasing impact strength with increasing 
thickness. The AS/S-glass in the ~40,0,10 angle-ply however gave no increase 
in impact energy up to 0.200 in. thicknesk. Above this thickness level the rise 
in impact energy was essentially the same as that for the +22,0 angle-ply. The 
AS/Kevlar +22,0 laminates gave an opposite trend with impact energy increasing 
up to 0.250 in. thickness before leveling off at an energy level below the two 
AS/S-glass systems. This is probably a reflection of the predominance of the 
shear failure mode in the thicker laminates coupled with the poor shear capability 
of Kevlar 49 reinforcement. 
With the two angle configurations using the AS/S-glass system, as previously 
found, Fig. 38, the ~40,0,10 configuration has a higher impact energy than the 
+22,0 using specimens up to 0.354 cm (0.140 in.) thick. Beyond this level the 
latter angle-ply provides a higher impact resistance. This may be due to the 
higher flexural strength of the +40,0,10 composite at the 0.254 cm thickness 
level (see Table XXII) which is reflected by the failure mode being in bending 
rather than shear which predominates for the standard Charpy specimens. 
Comparison of the three ,:!:22,0 angle-ply types indicates, particularly with 
the HMS/S-glass and AS/Kevlar 49 composites, a definite change in impact energy 
levels near the 0.508 cm (0.200) thickness range. This may well be the thickness 
range where the failure mode changes from predominantly bending to shear. 
The instrumented Charpy load-time traces of these same composj;tes are shown 
in Figs. 40-43. 
The influence of specimen thickness is clearly seen in each case with a 
substantial change in the curve shape occurring above the 0.100 in. level in 
terms of time to reach the maximum load level. Above 0.200 in. thickness the 
traces with minor exceptions tend to follow the same pattern. These results 
indicate that a change in fracture mechanism occurs in the vicinity of a span-
to-depth ratio of 10-15/1. 
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~ Table XXIV 
Angle-Ply Hybrid Fiber Composites of Varying Thickness 
Charpy Charpy 
Composite Thicknessa Density Impact Energyb Impact Energy/Unit Areab 
No. ~ Fiber Cro~s-Ply cm (in.) g/S!ca Joules (ft-lbs) JOules/cm2 (ft-1bs/in. 2 ) 
NASX-6 1-UARL AS/S-g1ass +22,0 0.127 (0.050) 1.74 1.68 (1.2) 13.2 (61.0) 
0.279 (0.110) 1.69 4.76 (3.4) 17.2 (78.5) 
0.508 (0.200) 1.70 11.75 (8.4) 23.2 (106.2) 
0.772 (0.304) 1.75 21.2 (15.1) 27.4 (125.0) 
1.05 (0.413) 1.74 39.2 (28.0) 37.4 (176.0) 
NASX-9 12 AS/Kevlar +22,0 0.1245 (0.049 ) 1.56 1.32 (0.93) 10.6 (48.2) 
0.246 (0.091) 1.56 3.64 (2.6) 14.75 (68.0) 
0.569 (0.224) 1.62 13.3 (9.5) 23.4 (107.6) 
0.748 (0.296) 1.55 15.6 (11.15 ) 20.9 (95.8) 
:) 1.00 (0.394) 1.56 25.2 (18.0) 25.9 (116.0) 1'\: 
NASX-12 2-UARL HMS/S-glass +22,0 0.117 (0.046) 1.79 0.76 (0.54) 6.5 (29.8) 
0.262 (0.103) 1.75 1.85 (1.32) 7.1 (32.6) 
0.503 (0.198) 1.76 6.3 (4.5) 12.5 (57.7) 
0.74 (0.291) 1.76 10.8 (7.7) 14.6 (67.4) 
0.985 (0.388) 1.75 18.2 (13.0) 18.5 (84.6) 
NASX-5 l-UARL AS/S-glass !,40,0,10 0.223 (0.088) 1.755 4.2 (3.0) 18.8 (86.5) 
0.468 (0.184) 1.725 8.8 (6.3) 18.7 (87.0) 
0.721 (0.284) 1.725 16.1 (11.5) 22.3 (103.0) 
0.965 (0.380) 1.71 30.8 (22.0) 32.0 (146.5) 
aAverage of 3 values measured using specimens cut for instrumented Charpy test 
bAVerageof 2 tests 
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The Pi and Pmax of the +40,0,10 AS/S-glass intraply system at all thick-
nesses are the same, however, in the ~2,0 angle-plys Pi and Pmax are different 
for the 0.050 and 0.100 in. thick composites. The opposite holds true for the 
AS/Kevlar 49 interply laminates where Pi and Pmax Were the same at the two lower 
thicknesses but occur at different loads at 0.250 in. thickness and greater. The 
HMS/S-glass intraply composites Pi and Pmax appear equivalent with the possible 
exception of the 0.200 in. thick specimen. 'rhese variations again indicate a 
possible shift in predominant impact fracture mode in the 0.100-0.200 in. thick-
ness range. 
Further conformation of the change in failure mode mechanism was obtained 
by comparison of calculated shear and bending stresses (from Pi and Pmax respec-
tively) with shear and bending stresses measured in a conventional slow bend 
test using the same span as in the Charpy impact test. These results are listed 
in Table XXV. 
There is, in general, good correlation between the static and dynamic stress 
levels particularly where marked changes in stress occur. Although there is some 
overlap, the 0.100-0.200 in. thickness range appears to be the critical range as 
indicated above for changes in fracture mode. 
3.2 Balli$tic Impact Properties of Multi-Fiber Angle-·Ply Epoxy Resin 
Composites 
To correlate the pendulum impact properties of the angle-ply composites with 
ballistic impact characteristics, a series of 36 ballistic impact specimens was 
fabricated using the three angle-ply configurations and three hybrid constructions 
previously described in section 3.1. The test specimens were obtained by cutting 
two 5.08 cm (2 in.) x 22.85 cm (9 in.) specimens from a 11.32 cm (4.5 in.) x 
25.4 cm (10 in.) panel. Specimen thicknesses ranged from 0.252 cm (0.095 in.) 
to 0.343 cm (0.135 in. ) depending upon layup design. Torsion and bending moduli 
.. Tere measured before impact for each specimen. Specimens were then ballistically 
impacted using jelly spheres, 1.27 cm (0.5 in.) diameter, at room temperature. 
Tests were conducted using four different prOjectile velocities, 183, 213, 243, 
and 274 m/sec (600, 700, 800, and 900 ft/sec) to ascertain the threshold and 
structural damage levels of each angle-ply hybrid fiber combination. The torsion 
and bending moduli were remeasured on the impacted specimens as a measure of the 
extent of damage. The results of these measurements are listed in Tables XXVI-
XXVlII and illustrated graphically in Figs. 44-46 in terms of shear modulus 
retention vs proj ectileveloci ty for each composite type and angle-ply • 
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Table xx::v 
Comparison of Dynamic and Static Shear and Bending 
Stresses at Varying Composite Thickness 
Composite Shear Stress, psi Bending Stress, ksi 
No. (Thickness..;.in. ) Dy .a Static Dynamic a Static nanuc 
NASX-6 AS/S-g1ass 1830 1540 140.0 161.5 
(+22,0) -(50) 3600 4230 130.5 158.0 
-(100) 8320 5920 130.0 143.0 
-(200) 9620 4340 99.6 45.0 
-(300) 10900 4420 83.0 33.4 
-(400) 
NASX-5 AS/S-g1ass 
(+40,0,10) -(100) 3680 3410 132.5 122.0 
-(200) 5430 5770 94.4 98.3 
-(300) 6470 8000 36.6 89.2 
-(400) 7580 8740 36.9 72.3 
NASX-9 AS/Kev1ar 49 
(:,,22,0 ) -(50) 1140 1120 74.8 72.6 
-(100) 3060 3460 100.0 113.0 
-(200) 3300 4330 46.8 56.2 
-(300) 3100 4270 38.3 45.3 
-(400) 3820 5280 31.2 30.7 
NASX-12 m~/S-glass 
(+22,0) -( 50) .. 1240 1400 68.8 97 .0 
-(100) 1670 1880 79.6 74.0 
-(200) 2060 3240 34.7 51.4 
-(300) 2610 3740 28.0 41.1 
-(400) 2810 5130 21.9 30.75 
aCa1culated using conventional beam equations from Pi (shear) and Pmax (bending) 
i:l_. 
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Table XXVI ] 
l 
i 
Ballistic Impact Data , l ~ 
Ply Configuration and Hybrid Fiber Study 
Type UARL-l AS/S-glass Intraply 
Bending Shear 
Composite Projectile Modulus Modulus 
No. Anfile-P1l Velocitla Retention~%~ Retention~%) 
I (fps) m/sec 
B-4-R +40,0,10 (608) 186 100 100 
B-4-L (694) 212 100 100 
B-13-R (805) 246 100 80 
B-13-L (832) 254 97 75 
B-5-R !.22,0 (589) 180 98 100 
B-5-L (703) 214 93 100 
B-14-R (830) 253 100 95 
B-14-L (922) 281 100 62 
B-6-R +45,0 (588) 179 100 100 
B-15-R (728) 222 100 100 
B-6-L (808) 247 99 100 
B-15 .. L (910) 278 100 43 
aActual projectile velocity 
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Table XXVII 1 
Ballistic Impact Data ~ ! , 
. 
Ply Configuration and Hybrid Fiber study f 
Type 12 - AS/Kev1ar 49 Interp1y ,; 1 j 
c~ 
1 Bending Shear J 
Composite Frojectile Modulus Modulus i 
No. AnSi1e-F1~ Velocitya Retention'%) Retention'%l I (fps) m/sec Of 
B-7-R ,!,40,0,10 (595) 182 100 100 i 
B-7-L (698) 213 100 100 I B-16-R (823) 254 100 80 B-16-L (900) 275 95 73 
1 
A 
<I 
B-8-R +22,0 (603) 184 100 100 1 
B-8-L (700) 214 100 100 1 B-17-L (842) 257 100 100 ~ 
B-17-R (910) 278 100 65 A l 
! 
+45,0 (611) 187 l B-9-R 100 100 1 ~ 
B-9-L (707) 216 100 19 
B-18-R (819) 250 92 3~~ 
B-18-L (910) 278 86 24 
aActual projectile velocity 
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Table XXVIII 
J 
Ballistic Impact Data , i 
Ply Configuration and Hybrid Fiber Study l 1 
Type UARL-2 HMS/S-glass Intraply 
Bending Shear 
Composite Projectile Modulus Modulus 
No. An5le-Pl;z:: Velocitya Retention( %) Retention (%1 
(fps) m/sec 
B-l-R +40,0,10 (605) 185 87 70 
B-l-L (702) 214 90 50 
B-10-R (805) 246 89 49 
B-10-L (878) 268 88 38 
B-2-R +22,0 (597) 182 100 88 
B-2-L (721) 220 95 76 
B-ll-R (804) 245 75 48 
B-ll-L (887) 273 57 34 
B-3-R +45,0 (600) 182 100 76 
B-3-L (695) 212 100 45 
B-12-R (805) 246 79 31 
B-12-L (900) 275 54 21 
aActual projectile velocity 
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FIG. 44 
SHEAR MODULUS RETENTION VS PROJECTILE VELOCITY HYBRID FIBER COMPOSITES 
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SHEAR MODULUS RETENTION VS PROJECTILE VELOCITY HYBRID FIBER COMPOSITES 
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3.2.1 Correlation of Percent Shear Modulus Retention with Projectile 
Velocity 
It is apparent that shear modulus retention is a more sensitive measure of 
impact damage than is bending modulus retention. With the exception of the 
intraply HMS/S-glas8 system little change in bending modulus was noted even at 
the 275 m/sec (900 fps) range. As seen in Figs. 44 and 45 the AS/S-glass and 
AS/Kevlar 49 composites in both the ±?2,0 and +40,0,10 angle-ply configurations 
are nearly identical in terms of threshold damage levels, 259 m/sec (850 fps) 
and 214 m/sec (700 fps) respectively for the two angle-plys with the Kevlar 49 
hybrids being slightly superior. The +45,0 angle-ply composites showed a distinct 
difference between the S-glass and Kevlar 49 hybrid AS laminates, 243 mlsec 
(800 fps) vs 152 m/sec (500 fps) threshold energy damage. The HMS/S-glass system 
gave a continuous drop in shear modulus at all velocities and was considerably 
poorer than the AS systems in all three angle-ply configurations. 
Indication of the extent of damage at 275 m/ ~H'C (900 fps), somel-That above the 
threshold damage level for the AS/S-glass intraply !22,O composite, is shown in 
Figs. 47 and 48. The corresponding test specimen for AS/Kevlar 49 interply !22,0 
laminate is shown in Figs. 49 and 50. There appears to be only small amounts of 
delamination in either case, with no loss of any of the composite by spalling 
which characterized the ill4S/S-g1ass laminates as shown in Figs. 51 and 52. 
Comparison of the Charpy impact results as shown in Fig. 39 for varying 
thicknesses with the ballistic data showed that at the lower thickness levels, 
<0.356 cm (0.140 in.), the AS/S-glass and AS/Kevlar 49 composites gave nearly 
the same pendulum impact energy while the HMS/S-glass was lower. In the pendulum 
impact test, however, the AB/S-glass !22,0 system was rated slightly superior to 
the corresponding Kevlar 49 hybrid which is the reverse of the ballistic data. 
3.2.2 Correlation with Total Charpy Impact Energy 
An alternative comparison between the two sets of test data is seen in 
Fig. 53 which relates the ballistic shear modulus retention to the total Charpy 
impact energy on a specimen thickness basis. It is apparent that in the thin 
specimen range the data is more compatible between the two tests than. for thick-
nesses above • 508 cm~ O. 200 in.). Again in this correlation the inte:rply 
Kevlar hybrid is slight~y superior to the intraply ASlS-glass system. Thus, it 
appears on this basis as~.,ell as the slow bend stress data that there is reason-
able but not total agreement between the ballistic and Charpy impact test data 
for ranking the composites at thickness levels below 0.508 cm (0.200 in.). It 
should be pointed out, however, that in the ballistic tests the effect of damping 
is not. accounted for and may be the reason that the Kevla.r 49 hybrid appears 
slightly superior to the S-glass system while the opposite is true for the pendulum 
impact results. In addition, the S-glass composite was impacted at 922 fpswhile 
the Kevlar 49 hybrid was impacted at 910 fps. 
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SPECIMEN NO: B-14-L 
TYPE: AS/S-GLASS, [:t. 22,0 + 22,O-22J S 
PROJECTILE: 
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VELOCITY: 
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SPECIMEN NO: 8-17-R 
TYPE AS/KEVLAR 49, [1: 22,0,+22,0-22] S 
PROJECTILE: 
1/2IN. GELATIN BALL 
VELOCITV: 
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RELATIONSHIP OF BALLISTIC TO PENDULUM IMPACT DATA 
SHEAR MODULUS RETENTION AT 900 FPS VS TOTAL CHARPY IMPACT ENERGY 
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3.2.3 The E/V Parameter 
The chief reason for the slight reversal in performance of the AS/S-glass and ~ 
AS/Kevlar 49 in the two tests (pendulum vs ballistic) is probably related to the 
differences in thickness of the laminates involved. Due to ply layup and con-
struction the Kevlar hybrid was 23 percent thicker in the ballistic test than the 
S-glass hybrid (0.343 em vs 0.289 em respectively). Significantly lower damage 
levels have been found in Modmor 11/286 epoxy systems by doubling the thickness 
during ice ball ballistic impact. As determined by C-scan inspection the extent 
of delamination was reduced from 30 percent to 4 percent with the increase in 
thicknes s (Ref. 8). 
To ascertain the effect of thickness on the results of the ballistic data 
from the present work, percent retention of shear modulus has been related to 
projectile energy and the impact affected volume of the composite. This is the 
energy the specimen is capable of absorbing in a given volume under the point of 
projectile contact. This will be referred to as the E/V parameter. 
Thus: 
where: 
or 
E/Y = Projectile Energy = 1/2 mass x (velocity)2 
impact affected volume volume 
impacted affected volume = (diameter of projectile)2 x 
mass of projectile 
velocity 
E/V = 1/2 g'cm2/sec2 = 
meter 3 
thickness in meters 
= grams 
= cm/sec 
dyne-cm = 
meter3 
ergs 
meter 3 
= JOUles x 10-7 
meter3 
English units for the parameter are ft-lbs/in. 3• 
specimen 
A recent report describes the use of a similar parameter in analyzing the 
residual strength of impacted laminates (Ref. 9). 
The width and length of the impact affected volume was arbitrarily chosen 
based on the diameter of the projectile. Any other width or length could be eIli-
ployed and. would only result in a shift of the resulting data points as long as 
the actual specimen thickness was used. The E/V parameter for each composite and 
angle-ply tested is listed in Tables XXIX to XXXI. 
The relationship of percent shear modulus retention to the E/V parameter is 
shoWn graphically in Figs. 54 to 56. The results show that with the ~2,0 com-
posites, when thickness is accounted for, the intraply.AS/S-glass lwminate is 
better than the interply AS/Kevlar 49 as was indicated by the pendulum impact 
test, Fig. 39, the intraply HMS/S-glass being considerably poorer. Similarly, 
using the +40,0,10 angle-ply configuration, Fig. 55, the intraply AS/S-glass was 
also found-to be superior to the interply AS/Kevlar 49. The difference between 
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Composite 
No. 
B-4-R 
B-4-L 
B-13-R 
B-13-L 
B-5-R 
B-5-L 
B-14-R 
B-l4-L 
B-6-R 
B-15-R 
B-6-L 
B-15-L 
Table XXIX 
Ballistic Impact Ply Configuration Study 
Correlation of Projectile Velocity and Specimen Thickness 
Type UARL-l AS/S-Glass Intraply 
Project~le Projectile Energy/ 
Velocity ImEact Affected Volume 
Angle-Ply (fps) m/sec Joules/m3x 108 
+40,0,10 (608) 186 4.02 
(694) 212 4.98 
(805) 246 8.12 
(832) 254 8.6 
+22,0 (589) 180 4.23 
(703) 214 5.55 
(830) 253 7.78 
(922) 281 9.55 
(588) 179 3.59 
(728 ) 222 5.13 
(808 ) 247 6.31 
(910) 218 8.88 
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Table XXX ! 
Ballistic Impact-Ply Construction Study 
J ~ 
~ 
Correlation of Projectile Velocity and Specimen Thickness 
.. I 
Type UARL-2 HMS/S-Glass Intraply 
1 
'~, 
1 
'~ 
" 
'?, 
Projectile Projectile Energy/ 
Composite Velocity ImEact Affected Volume (E/V) 
No. Ans;le-Ply (fps) m/sec JOules/m3 x 10 8 
B-J.-R +40,0,10 (605) 185 5.4 
B-J.-L (702) 214 6.94 
B-10-R (805) 246 8.08 
B-10-L (878 ) 268 9.38 
B-2-R +22,0 (597) 182 4.32 
B-2-'L (721) 220 6.46 
B-ll-R (8Q4) 245 7.87 
B-l1-L (887 ) 273 9.68 
B-3-R +45,0 (600) 182 4.13 
B-3-L (695 ) 212 5.62 
B-12-R (805) 246 7.86 
B-12-L (900) 275 9.88 
.. 
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, 
,. 
Composite 
No. 
B-7-R 
B-7-L 
B-16-R 
B-16-L 
B-8-R 
B-8-L 
B-17-L 
B-17-R 
B-9-R 
B...;9-L 
B-18-R 
B-18-L 
Table XXXI 
Ballistic Impact-Ply Construction Study 
Correlation of Projectile Velocity and Specimen Thickness 
Type 12 As/Kevlar 49 Interply 
Prqje~tile Projectile Energy! 
Velocity ImEact Affected Volume 
Angle-Ply (fps) m/sec Joules/mS x 108 
!,40,0,10 (595) 182 3.37 
(698) 213 4.32 
(823) 254 6.63 
(900) 275 7.71 
!,22,0 (603) 184 3.64 
(700) 214 4.95 
(842) 257 6.45 
(910) 278 7.76 
(611) 187 3.7 
(707) 216 4.86 
(819) 250 6.82 
(910) 278 8.45 
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the three angle-plys is also evident in that +22,0 > .:t.,40,0,lO > .:t.,45,O vTi'th the 
possible exception of the intraply AS/S-glass ±40,0,10 and +45,0 laminates which 
gave similar E/V values. Because of the lack of a sufficient number of data 
points the degree of improvement of the AS/S-glass over the AS/Kevlar 49 cannot 
be accurately determined. A more defini ti ve study of varyin15 composite thickness, 
varying angle-ply and additional projectile velocities must be carried out to 
establish the validity of using the E/V parameter obtained from the ballistic 
test to correlate with the pendulum impact data using thin impact specimens. 
3.2.4 Correlation of E/v Parameter with Charpy Fracture Ini'i.iation 
Load, Pi 
An alternative approach to correlation of the two tests is the relationship 
of the threshold damage E/V parameter to the fracture initiation load, Pi, ob-
tained in the pendulum impact tests. Using the four angle-ply composites which 
were ballistically impacted, this correlation is shmvn graphically in Figs. 57 
and 58. With the thin specimens, Fig. 59, the three intraply types, AS/S-glass 
(+22,0 and +40,0,10) and HMS/S-glass all fallon a line while the interply 
AS/Kevlar 49 is slightly below. A similar plot using the Pi loads from the 
standard sized Charpy specimens, Fig. 58, also resulted in the three intraply 
specimens falling on a straight line with the interply AS/Kevlar 49 composite 
falling considerably below. Because of the lack of sufficient data positive con-
clusions concerning this correlation cannot be made. However, it appears that 
(1) with intraply construction Pi correlates with E/V regardless of ply angle and 
primary fiber, (2) there is more general correlation between the pendulum and 
ballistic impact tests using the thin pendulum specimens, i.e. the interply 
AS/Kevlar 49 is in better agreement with the intraply data. 
3.2.5 Correlation of E/V Parameter with Total Pendulum Impact Energy 
An E/V value related to total destruction of the ballistic specimens should 
correlate with the total impact energy measured by the Charpy tests, particularly 
in the case of thin specimens. Although projectile veloci:ies were not sufficient 
to cause total destruction of the panels, a correlation of l~/V vs total Charpy 
impact energy is shown in Fig. 59 using the E/V values at S«,H) f'ps. In contrast 
to the Pi relationship, in this instance the three AS graphite hybrid la:minates 
fallon a line irrespective of angle-ply or construction type while the EMS/ 
S-glass laminate falls well below. A similar plot of the same E/V values vs 
total impact energy obtained using standard size Charpy specimens resulted in 
complete scatter of the data points with no correlation. 
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Thus, the E/V parameter appears to have merit in correlating ballistic and 
pendulum impact results both for relating initial fracture levels or total des-
truction levels. The scope and value of the parameter as it relates to composite 
structure, angle-ply and fiber 'composition cannot be definitely defined until 
further study has been carried out. It can be concluded, however, that use of the 
E/V parameter appears to be the best method deVeloped to date for correlating 
ballistic and pendulum impact results and merits further study. 
3.3 Thin Unidirectional Hybrid Composites 
In order to make a judicious selection of the final composite laminates to 
be more fully evaluated in Tasks III and IV, a series of Task I unidirectional, 
multi-fiber composites was refabricated for evaluation in the thin pendulum 
impact test. 
Based on the angle-ply ballistic and multi-thickness Charpy impact results, 
a thickness level of approximately 0.254 cm (0.100 in.) was selected for the 
series of thin unidirectional composites (having greater than 19 x 106 psi modulus) 
to be tested by instrumented Charpy impact. The laminates consisted of nine 
HMS/S-glass, three HMS/Kevlar 49, two AS/S-glass and two ASjKevlar 49 systems. 
In addition, the homogeneous graphites, S-glass and Kevlar 49 composites were 
also impacted at the same thickness level. The flexural and shear strengths of 
the sixteen hybrid composites were also determined. The physical properties of 
the hybrid laminates are listed in Table XXXII. For' convenience in identification 
the same composite number used in Task I has been employed. Previous results may 
be found in Table IV. Ivi th few exceptions, reproducibility was good. Minor shifts 
in S-glass content will be noted due to a change from 20-end to l2-end S-glass 
roving. Composite flexural and shear strengths are listed in Table XXXIII. (For 
comparison see Tables V-VIII.) 
3.3.1 Static Properties 
All of the laminates gave modulus values above the 19 x 106 psi minimum with 
one exception. This was the tow-by-tow AS/S-glass,NAS-76II, laminate which has 
consistentlY given the highest impact response of any of the laminate types tested. 
All the composites, except tw'o, gave slightly higher flexural strengths than pre-
viously obtained while shear strengths varied in a haphazard manner. Failure 
modes were the same as previously encountered. Some of the differences are un-
doubtedly due to use of different lots of AS and HNS graphite fiber. 
3.3.2 Dynamic Properties 
The impact properties of the composites are listed in Tables XXXIII and XXXIV. 
The results correlate well with the angle-ply ballisti(! data in that the intra-
ply AS/S-glass (NAS-76 II) and interply AS/Kevlar (NAS-13 II) laminates. gave nearly 
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Table XXXII 
Physical Properties of Task II Unidirectional 
Hybrid Fiber Epoxy Composites 
vlo 
vlo Fiber 
Composition Density Total vlo vlo Ratio 
UARL No. Type {glee} Fiber Resin Void (actual) 
NAS-9II 13 1.86 HMS-36.5 33.8 0.6 HMS-56 
8-28.8 s-44 
-1011 13 1.75 H.11S-51.1 33.3 2.4 HM8-78.2 
S-13.2 S-21.8 
-15A-II 13 1.71 HMS-60.7 30.8 3.1 HlVlS-91. 5 
S-5.5 s-8.5 
-2411 17 1.69 HMS-58.1 32.7 3.7 HMS-91.2 
S-5.7 s-8.8 
-36II 2-UARL 1. 73 HMS-43.4 38.3 2.3 HMS-73 .. 
s-16.1 S-27 
) 
-55II 20a_1 1.70 HMS-52.2 33.5 4.2 HMs-83.7 
S-10.3 s-16.3 :~ 
~: 
-5411 20a_2 1.70 HMS-62.8 28.8 4.1 HMS-93.5 J '" S-4.3 s-6.5 ~ ~~ 
:f: 
-47D 1.84 HMS-45.4 30.8 HMs-64 
,-;¥ 
2-Heltra 1.3 ~ 
s-24.6 8-36 
~ 
;{ 
;,~ 
~;; 
;1 
-6n 1.66 AS-58.9 35.6 0 AS-91.5 ~ 11 ~ 
S-5.5 S-8.5 r 
i 
~ 
-7611 I-DARE, 1.75 AS-51.0 30.8 0.9 AS-74.6 i 
8-17.3 8-25.4 , 
'f' 
, 
! , 
-12A-II 14 1.61 HMS-56.9 31.2 4.7 HMS-89 ~ 
K-7.1 1\-11 i , 
. i 
"';'IIA-II 14 1.53 HMS-35.8 23.6 3.6 IDo1S-49.2 
K"'37.0 K-50.8 
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Table XXXII (Cont'd) 
v/o 
v/o Fiber 
Composition Density Total v/o v/o Ratio 
UARL No. TyPe (g/ee) Fiber Resin Void 
-
(actual) 
NAS-28 II 18 1.60 HMS-56.9 32.B 5.4 HMS-92 
K-4.8 K-B.o 
-13II 12 1.57 AS-54.2 3B.6 0.8 As-89.4 
K-6.4 K-10.6 
-78II 3-UARL 1.60 AS-56.1 31.5 1.3 AS-83.6 
K-11.1 K-16.4 
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" Table XXXIII ~. 
Flexural, Stear find Pendul.UIll Impact Energies of Thin Unidirectional 
Eybrid F:i.ber Epoxy Resin Compositesa 
vIc Charpy Impact 
Fiber Short Bearrt Flexural Flexural Strength 
Compositioll Ratio ShearP Strengthc Modulusc Joules/ (ft-lbS/) 
DARL No. Type (actual) MN/m2 lusi) GN/m2 (ksi) GN/m2 (psixl06) cm2 in2 
NAS-9I1 13 EMS-56 45.0 (6535) 1.345 (195.5) 146 (21.2) 17 (78.2) 
8-44 
-1011 13 HMS-38.2 50.7 (7350) 1.37 (199) 1,88 (27.25) 12.8 (59.4) 
S-21.8 
" l-' -15A1I 13 BMS-91.5 41.3 (5985) 1.55 (224.5) 207 (30.1) 9.24 (44.8) 
w s-8.5 f\) 
-2411 17 HMS-91.2 44.6 (6470) 1.31 (190.5) 166 ( 24.,1) 10.9 (50.4) 
S-8.8 
-3611 . 2-UAR'G HMS-73 41.1 (5970 ) 1.26 (183) 159 (23.0) 12.9 (59.3) 
S-27 
-55I1 20$.~1 HMS-33.7 40.1 (5810) 1.68 (243.5) 145.5 (21.1) 13.2 (60.8) 
S-16.3 
-541! 20a_2 HMS-93.5 40.2 (5825) 1.30 (189) 162 (23.5) 9.55 (44.0) 
s-6.5 
, 
-7211 9 BMS-85.2 43.2 (6270) 1.37 (198.5) 184 (26.7) 10.3 (47.4 ) 
" [I S-14.8 
[I 
-47D 2-Heltra RMS-b4 36.7 (5300) 1.25 (181.5) 158 (22.95) 10.8 (54.5) d 
S-36 
.. t. o 
t 
I 
I 
~. Table XXXIII (Cont'd) v/o Charpy Impact 
Fiber Short Beam Flexural Flexural Strength 
Composition Ratio She arb StrengthC Modulusc Joules/ (~v-lbS/) 
UARL No. me (actual) MN/m2 (psi) GN/m2 (ksi) GN/m2 (psixl06) cm2 in2 
NAS-6II 11 AS-91.5 125.5 (18,200) 2.39 (346.5) 148 ( 21.55) 16.5 (76.5) 
S-8.5 
~ 
! -76I! l...;UARL AS-74.6 118 (17,100) 1.98 (285.5) 122 (17.7) 23.2 (107) 
S-25.4 (270.8) 
, 
r 
l' -l2AII 14 HMs-89 46.6 (6760 ) 1.58 (229 ) 202 (29.2) 9.04 (41.6) 
~ K-l1 
, .. -11AII 14 HMS-49.2 50.2 (7288) 1.25 (181) 138.5 (20.1) 12.7 (58.6) 
,. 
K-50.8 , ~ 
(' 
I-' 
w 
-2811 18 HMS-92 44.0 (6380) 1.42 (206) 148 (21.5) 10.1 (46.5) w 
K-80 
-1311 12 As-89.4 100 (14,450) 1.96 (285) 138 (19.9) 19.6 (90.4) 
K-I0.6 (237) 
-78I! 3-UARL AS-83.6 80 (11,650) 1.875 (272) 132 (19.15) 19.3 (89.0) 
! K-16.4 (293) 
I 
-lAI1 AS AS-59 124 (17,980) 1.90 (275) 125 (18.1) 15.1 (69.7) 
, 
, , 
r, : 
~> 1 
-3AII S-glass s-66 109 (15,870) 1.90 (275) 56 (8.1) 56.3 (259.5) 
, 
-5AII Kev1ar K-66.9 41.6 (6030) 0.68 (98.4) 75.8 (11) 15.7 (72.6) 
-61II EMS EMS-63 49 (7100) 1.185 (172) 190 (27.5) 8.72 (40.2) 
aAverage of' tiVo tests 
~ bSpan~to-depth = 4/1 c3-point flex, 3211 J 
r;-' ·,,·t~"'''·I!'I<'~m~ __ '''''-i'''''' ~'-.. " 
UARL No. 
NAS-9I1 
-1011 
-15AII 
-24n 
-36II 
-5511 
-54II 
-7211 
-47D 
-611 
-76n 
... 12AII 
-11AII 
-28II 
-13II 
-78lI 
-lAII 
-3AII 
-5AII 
-6111 
Table XXXIV 
Impact Data for Thin Unidirectional Hybrid 
Fiber Epoxy Composites 
Charpy Impact 
Composition Pi = Pmax Strengtha 
Type Fiber Newtons (lbs) Joules (fj;-lbs) 
13 HMS/S-glass 534 (120) 2.76 ( 1.97) 
13 " 534 (120) 1.96 (1.40 ) 
13 " 534 (120) 1.93 (1.38) 
17 " 623 (140) 2.2 (1.57) 
2-UARL " 710 (160) 3.05 (2.18) 
20a_l " 
20a_2 " 
9 " 
890 (200) 2.74 (1.96) 
1110 (250) 2.58 (1.84) 
712 (160) 2.07 (1. 48) 
2-Heltra " 391 (88) 1.3 (0.93) 
11 AS/S-glass 624 (140) 3.36 (2.40) 
l-UARL " 1200 (270) 4.57 (3.27 ) 
14 HMS/Kevlar 712 (160) 1.85 (1.32) 
14 " 624 (140) 2.31 (1.65) 
18 " 756=Pi= (170) 2.26 (1.61) 935=Pmax=(210) 
AS/Kevlar 12 1065=Pi= (240) 4.48 (3.20) 
1690=Pmax=(380) 
" 3-UARL 710=Pi= (160) 4.17 (2.98) 1242=Pmax=(280) 
AS 1420 (320) 2.44 (1. 74) 
S-glass 1020=Pi= (230) 8.34 (5.95) 1420+=Pmax= (320+) 
Kevlar 23~=Pi= (52) 1.88 (1. 34) 334=Pmax=(75) 
HMS 666 (150) 1.16 (0.83) 
aaverage of two tests 
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the same impact response, 107 and 90.4 ft-lb/in. 2 respectively, while the intra-
ply m~S/S-glass laminate (NAS-36 II) was lower, 59.4 ft-lb/in. 2 • It should also 
be noted that the fracture initiation energy, Pi, of the hybrid composites is 
similar to or less than the Pi obtained for the respective homogeneous graphite 
laminates. These data indicate that hybridization while improving total energy 
adsorption capability may not result in marked improvements in threshold damage 
levels as measured ballistjcally. 
A plot of flexural modulus vs impact energy shown in Fig. 60 identifies the 
six laminate types ,.,hich meet the criteria for further evaluation in Tasks III 
and IV. These are: 
a. NAS-9 II - HMS/S-glass (50 vlo) interply 
b. nAS-J.O II - HMS/S-glass (25 vlo) interply 
c. ~AS-36 II - HMS/S-e;lass (25 via) intraply 
J. !JAS 6n - AS/S-glass (10 via) interply 
e. HAS 13 II ,.. As/Kevlar 49 (10 via) interply 
f. NAS ~(8 II - As/Kevlar 49 (15 via) intraply. 
The selection of these six composites will be discussed in more detail below. 
To provide added emphasts for the use of the thin Cliarpy impact specimen to 
correlate .lith ballistic data it was of interest to compare the standard specimen 
(thick specimens) in the same manner to determine any differences in selection Which 
would have resulted if the selection 'Were made at the end of Task I. Figure 61 
illustrates the differences obtained with the thick specimens using data from 
Task I for the sallle sixteen unidirectional composites. Based on these results only 
three of the above composites, b, c and e, .Tould have been chosen for study in 
Tasks III and IV. In addition, a large difference in the relative impact response 
of AS graphite, Kevlar 49 and HlilS graphite homogeneous laminates was found. With 
thin speci~ens AS and Kevlar 49 gave essentially the same impact energy with m~s 
approximately 40 percent lower, while with the standard sized specimens Kevlar 49 > 
AS > HMS. 
The core-shell HMS/S-glass and Kevlar 1~9 laminates as well as the interply 
ffi4S/Kevlar 49 laminates show the same relative response of modulus to impact 
energy in both the standard and thin Charpy specimens. TheSe results indicate 
the impact response of the Various hybrid laminates to thickness changes is 
di'fferent depending upon the primary as well as secondary fibers employed as well 
as the type of ply layup. Additional investigation of the thickness effect must 
be carried out before any definite conclusions can be made. 
3.4 Analysis of Thickness Effects 
As previously discussed in Section 2.2.3 shear stress and flexural stress 
interaction diagrams· ,.ere constructed for a unidirectional hybrid fiber (!om.Posite 
to determine the maximum L/h value at which failure should occur in interlamina.:r 
shear. Above that point failure should be controlled by flexural prope:rties. 
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Similar calculations were carried out using the angle-ply data for two of the 
four angle-ply composites evaluated. These were m~S/S-glass [~22,0,+22,0,-22]s 
NASX-12 and AS/S-glass (+40,0,+10,0,-10]s UASX-5. The shear stress interaction 
diagrams are shown in Figs. 62 and 63. In both instances it is apparent that the 
theoretical beam equations ernployed do not relate to angle-ply systems but are 
only applicable for unidirectional laminates. Reasonable agreement between theory 
and results obtained from pendulum impact and slow bend tests was found at high 
L/h values, i.e. in the flexural failure mode area, but at low L/h, approaching 
the shear failure mode area, deviation from the theoretical curve was evident. 
Similar effects were found in the flexure stress interaction diagram for the two 
composites, Figs. 64 and 65. 
The type of analysis required to develop new beam equations for shear and 
flexure stresses in ,angle-ply composites is beyond the scope of this program. 
Therefore, no further effort to determine thickness effects as they relate to 
failure modes in these composites was carried out. 
3.5 Conclusions from Task II Results 
The (+40,0,+10,0,-10]s angle-ply configuratio~ is superior to [~22,0,+22,0,-22]s 
configuration in pendulum impact resistance while the reverse is true in terms of 
composite modulus for AS/S-glass and ID>1S/S-glass intraply and AS/Kevlar 4,9 interply 
laminates. The [+45,0,+45,0,-45]s configuration is inferior to the other angle-plys 
in both modulus and linpact resistance. 
For each angle-ply tested the AS/S-glass intraply laminate offered the best 
combination of modulus and pendulum impact energy. 
A definitive change in impact energy levels and presumably fracture mechanism 
OCCllrs near the 0.508 cm (0.200 in.) thickness range when decreasing the angle-ply 
composite thickness, from that of a standard Charpy specimen. This is apparent in 
total impact energy obtained, load-time trace curves and comparison of static and 
dynamic shear and bending stresses calculated from slow bend. and impact tests. 
In ballistic impact the intraply AS/S-glass and interply AS!Kevlar 49 lami-
nates attain similar threshold d81tlage levels using the [+22,0,+22,0,-22]s and 
[+40,0,+10,0,-10]s angle-ply construction. The Kevlar-hybrid is slightly superior 
in both instances. The HMS/S-glass intraply laminate in all three angle ply 
configurations was considerably poorer. This was true when correlating percent 
.: 
shear modulus retention with projectile velocity or total pendulum impact energy. • 
A ballistic impact parameter (E/V) which relates projectile energy and im-
pact affected volume of the specimen has been shown to provide improved corre-
lation between the ballistic impact data and pendulum impact data, resUlting in 
the same ranking order for laminates impacted in the two tests. The E/V parameter 
accounts for thickness variations in the present study. 
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With the intraply construction it was shown that fracture initiation load 
(from pendulum impact) correlates with the ballistic threshold damage parameter, 
E/V regardless of ply-angle or primary graphite fiber. The E/V value near the 
point of total destruction under ballistic impact correlates with the total im-
pact energy obtained in thin Charpy specimens regardless of angle-ply or hybrid 
construction but differentiates between primary graphite fibers. 
Damage threshold levels as measured in thin Charpy hybrid specimens were 
lower than those measured with homogeneous graphite specimens. Thus, it appears 
that hybridization did not increase the resistance to initial fracture. How-
ever, total energy absorption or resistance to catastrophic failure was increased. 
3.6 Selection of Laminates for Evaluation in Tasks III and IV 
As indicated in Section 3.3 above, the six selected laminates for further 
evaluation in Tasks III and IV provide the best combination of impact level 
together with other mechanical properties. This conclusion is based on the test 
results from all fabricated laminates in Tasks I and II. The criteria used for 
selection was as follows; (1) impact level; (2) When compared with the mechanical 
properties of unidirectional homogeneous composites made from primary fibers, tbe 
candidate laminates shall bave (a) flexural and short beam shear strengths not 
less tban 80 percent and 70 percent, respectively of the strengths of the homogeneous 
composites, and (b) composite flexural modulus not less than 19 x 106 psi. Tbe 
selections Vi"ere submitted to and approved by the NASA-LeRC Projer:t Manager. 
Because the tow-by-tow AS/S-glass system (NAS-76) had consistently given high 
impact response, it was included in the group for Tasks III and IV to give a total 
of seven laminate types rather tban six. As shown in Fig. 61, this system does not 
meet the modulus requirement. However, it does, give the same modulus level as 
obtained with the homogeneous AS graphite system. 
The mechanical properties of the seven selected hybrid fiber composites are 
listed in Table XXXV. They include three IDvrS/S-glass (one tow-by-tbw and two 
interply), two AS/S-glass (tow-by-tow and interply), and two AS/Kevlar 49 III 
(tow-by-tow and interply) lruninate types. The AS/S-glass and AS/Kevlar 49 inter-
ply composites could also be considered as core/shell since they consist of one 
hybrid fiber layer inserted between eight AS graphite layers. 
The order in terms of impact response is different based upon standard sized 
Charpy and thin Cbarpy specimens which reflects the difference in primary failure 
mode between the two thickness levels. This difference is most apparent in the 
HlvIS/S-glass composites which by standard Charpy shows the tow-by-to;f construction 
(NAS-36) to be superior to the interply type (NAS-9 and 10). This is due, as 
previously discussed, to the out of plane shear failure of the tow-by-tow con-
struction. In the thin Charpy laminates the level of S-glass content appears to 
control impact energy. NAS-9 (50 v / 0 glas S',) had a. higher impact energy than 
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Table XJ:XV 
Mechanical Properties of Hyprid Fiber Composites for Task III and IV Evaluation 
HMS/S-g1ass HMS/S-g1ass RMS/S-g1ass AS/S-glass AS!S-glass AS/Kevlar AS/Kevlar 
2-UARL Type 13 Type 13 1-UARL Type 11 3-UARL Type 12 
NAS-36 NAS-9 IifAS-10 NAS-76 NAS-6 NAS-78 NAS-13 
F1exurala 177 198 195 278 295 283 261 
Strength, 
ksi 
.Modulusa , 21.8 19.4 27.9 18.1 19.7 19.15c 19.7 
psi :x 106 
Sheara , 7085 7200 7725 17,675 16,660 12,880 12,125 
psi 
Impactb 24.5 20 18 37.5 30 19 21 
Standard 
Charpy, ft-lbs 
Thin CharpyC 59.3 78.2 59.4 107 76.5 89 90.4 
ft-1b!in. 
aaverage of five tests 
b average of three tests 
c 
aVerage of two tes.ts 
~ ~ .: 
[l-iU, t .71" ...... 1'1 J, Ii: Iii 11 t .*_ fi ;~li!;t;:'''r.~· •• ~ .. k~~.;'''.1rt~.H?B~;.\~· ..... ·'"r;'~,....;i.%b·~,~ ...... ;j$W~'H~W~~';".:l;;;';tI:;·'·· .; ~.:', .-;-; .'f- "-" ·'""".4 ... ,..a¢::,; ....... ". ""~·'",>flw-. ~~.,~.l~'.f 
either NAS-10 (22 vlo glass-interply) and NAS-36 (27 v/o glass-intraply) which 
gave the same. impact response. This indicates that shear failure is of minor 
importance in the thin Charpy, and presumably in ballistic impact at the Llh 
ratios used. 
Comparison of the AS/S-glass and AS/Kevlar composites also shows the effect 
of specimen thickness. With standard Charpy specimens the two AS/S-glass lami-
nates were considerably higher in impact response than the Kevlar hybrids. In 
the thin impact specimenr the AS/Kevlar laminates are intermediate between the 
AS/S-glass intraply (tow-by-tow) and interply constructions. 
IV. MBCHANICAL PROPERTY CHARACTERIZATION OF UNIDIRECTIONAL COI-1POSITE LAMINATES -
TASK III 
In order to gain a more complete understanding of the effects of hybrid fiber 
reinforcement and ply construction on the mechanical properties of epoxy resin 
matrix composites, a more comprehensive evaluation of the seven laminates selected 
at the end of Task II (Table XXXV) Was undertaken. The seven selected laminates 
were fabricated as before using unidirectional ply configuration in 11.4 cm 
(4.5 in.) x 2.6'j' cm (10.5 in.) panels from which were cut specimens for longitudinal 
tension and compression, transverse tension and compression and shear strength 
(StIlT' S~llc' S~22t, S~22c' and St12s) tests. The physical properties of the 
resulting lamina"'s are listed in Table XXXVI. For convenience, the composites 
are identified using the same numbers as used in Tasks I and II. All testing 
was carried out in triplicate. 
4.1 Interlaminar Shear strength 
The room temperature shear strengths obtained (S/D = 4/1) are listed in 
Table XXXVII together with the results previously recorded in Tasks I and II. With 
two exceptions, the Task III shear strengths fell between the averages of the 
two preVious tests. The two HMS/S-glass interply laminates gave higher shear 
levels than were previously noted. These laminates were made USing a different 
lot of lIMS fiber and as was previously mentioned va:t'iations in fiber lots have been 
noted. This undoubtedly accounts for the results obtained. 
All composite test specimens were characterized by shear failure as \fas pre-
viously found in Tasks I and II. These shear results are used in Task IV to 
correlate with the high and low temperature shear test data. 
4.2 Tensile Strength and Modulus 
The room temperature transverse and longitudinal tensile strengths and moduli 
of the seven selected composites are listed in Table XXXVIII. 
The transverse tensile strengths of the AS!S-glass inter and intraply lami-
nates are far superior to any of the other combinations with the latter type 
(tow-by-tow) having the highest strength (10,700 psi) as well as modulus. With 
the three HMS/S-glass composites the strength increased as the glass dontent 
increased in the interply type with the intra!lly (tow-by-tow) giving the lowest 
strength but the highest transverse modulus. A similar effect was found with 
the two AS/Kevlar laminates. The intraply configuration had the lower strength 
but higher modulus compared to the interply. These results reflect the differences 
in the two types of construction in that in the interply only the fiber layers 
Which have the highest transverse tensile properties are involved in load transfer 
while in the intraply type the combined fiber transverse properties are involved. 
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Table XXXVI 
} 
t 
,~ 
Physical Properties of Task III Hybrid Composites ;< 
!' ; 
vic , , 
via Fibel" 
Composite Composition Density Total vlo v/o Ra.tio 
No. Type (glee) Fiber Resin ~ (actual) '1 i 
·1 
l 
NAS-78 III Intraply 1.55 AS-51. 2 38.0 1.2 As-84.1 1 ;( 
Kevlar-9.6 Kevlar-15.8 
NAS-13 III Interply 1. 59 As-61.1 31. 3 1.11 AS-90.S 
Kevlar-6.2 Kevlar-9.2 
HAS-9 III Interply 1.65 HMS-33.9 49.1 2.4 lIT1S-70 
8-14.6 8-30 
~,i 
, 
NAS-I0 III Interply 1.65 HMS-44.5 44.6 2.9 1114S-85.0 1 8-8.0 S-15.0 ) 
.';: 
l'lAS-36 III Intraply 1.72 HMS-40.6 40.3 2.2 HMS-70.8 
.i 
8-16.9 U-29.~ f 
j 
~ 
NAS-6 III Interply 1.63 AS-50.7 4L.7 3.2 AS-90.S 
8-4.4 6-9.2 .1' :r 
::.; 
f. 
'I. 
NAS-76 III Intraply 1.68 As-46.5 1}1.3 3.7 AS-T?5 .~ i S-13.5 6-22.5 
i 
i 
I 
Table XXXVII 
Room Temperature Interlaminar Shear Strength of 
Hybrid Fiber Epoxy Composites 
Interlaminar Shear Stren~tha 
" 
Composite Construction Task I Task II 
No. Fiber Type ~1N/m2 (;psi) (;psi) (psi) 
NAS-78 III AS/Kevlar Intraply 90.5 (13,130) (14,120) (11,650) 
NAS-13 III AS/Kevlar Interply 83.8 (12,165) (10,800) (14,450) 
NAS-9 III HMS/S-glass Interply 70.4 (10,207) (7,940) (6,535) 
NAS-l0 III HMS/S-glass Interply 72.5 (10,560) (8,100) (7,350) 
NAS-36 III HNS/S-glass Intrap1y 1~3. 2 (6,270) (5,970) (8,200) 
NAS-6 III AS/S-glass Interply 116.5 (16,930) (18,200) (15,125) 
NAS-76 III AS/S-g1ass Intrap1y 112.0 (16,280) (18,250) (17,100) 
a s/n = 4/1; values are average of three tests 
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Table XXXVIII 
Transverse and Longitudinal Tensile Strength and Modulus 
of Hybrid Fiber Epoxy compositesa 
Transverse 
Composite Construction Strength godulus 
No. Fiber T"',llie MH/m2 (psi) GN/m2 (psixl06) 
HAS-78 III ASjKevlar Intraply 16.4 (2380) 14.8 (2.14) 
NAS-13 III AS!Kevlar Interply 26.2 (3790) 12.6 (1.83) 
NAS-9 III HlIS/S-g1ass Interply 32.8 (4750) 13.0 (1. 88) 
NAB-IO III EMS/S-g1ass Interp1y 25.7 (3725) 11.1 (1. 61) 
UAS-36 III EMS/S-glass Intrap1y 15.9 (2300) 13.6 (1.98) 
NAS-6 III AS/S-glass Interply 54.5 (7915) 11.7 (1. 7) 
£tAs-76 III AS/e-glass Intraply 73.8 (10,700) 15.9 (2.3) 
aA11 data a,'1,·f.)rage of three tests at roam tempet'ature 
~. ;"T n fliP n .nlr 111-.. run f' "'J,~~Jf,i.~~~;f<<.oi+'i"W4." ... n;e· ...... ~ .. ~.·.,t>:;-~,:~~· '·;><;'~!.i">' • 'J,;J:t"i-I,;",:(.il'::-'lt.'~:' <'c,,,,: !~,..- ,,:~- ·l·'t1"lo.'';:;·~~-''''''~·r--",'''·' ',,~ ;.- ~"'~'?' "g_ .... ~.,~..., -",;<,,:;.''''~.-,,''''' 
Longitudinal 
Strength Modulus 
GN/m2 (ksi) GU/m2 (psixlO6) 
1.68 (244) 122 (17.7) 
1. 78 (257.9) 143.5 (20.8) 
1.035 (150.25) 136 (19. 'f) 
1.14 (165.4) 143.5 (20.8) 
1.12 (162) 168 (24.35) 
1.63 (237.6) 115.5 (16.76) 
1.59 (231 ) 114 (16.5) 
,,,."':io..:-"'4*~~{'ko,.:.t~:.c-.;·)··,I'C,, •... " '-f!"" '" ~",; ~1',~·rt' ... ·L~,,",",,"~ ;""~<"~~" ~>: 4'''''!iI''~'.~:.-.:..tH~'fW.'I'>~;; 
. 
In contrast, longitudinal tensile strengths and modulus are relatively 
insensitive to the ply construction type. The differences which do occur appear 
to be related to the ratio of the two hybrid fibers employed in each composite 
system. 
4.3 Compressive Strength and Modulus 
The room temperature transverse and longitudinal strengths and moduli of 
the seven selected composites are listed in Ta,ble XXXIX. 
The transverse compressive strength and modulus of the AS/S-glass and 
HMS/S-glass intrb.ply composites were higher than those of the corresponding 
interply types in each case. In contrast, the AS/Kevlar intraply composite 
had a lower transverse compressive strength and modulus compared to the corres-
ponding interply laminate (NAS-9). This, as discussed above, reflects the use 
of the combined fibers in load transfer in the intraply systems as well as the 
poorer compressive properties of Kevlar 49 compared to S-glass. 
The longitudinal compressive strengths, as were the longitudinal tensile 
properties, appear to be relatively insensitive to ply construction and reflect 
more the ratio of the two fibers involved in each laminate. 
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V. FINAL COMPOSITE LAMINATE CONFIGURATION SCREENING - TASK IV 
The objective of this task was to perform more extensive properties studies 
on the seven selected laminates. In particular the effect of temperature and 
resin matrix on shear, flexural, and thin Charpy impact strengths as well as 
coefficient of thermal expansion has been determined. The three resin matrices 
used were ERLA-46l7 epoxy, PMR-15 polyimide (Ref. 10) and polyphenylquinoxaline 
prepared from monomeric reactants (Ref. 11). Fabrication procedures for each type 
are described in the Appendix. The seven laminates were divided between the three 
resin types as follows: 
Composite 
No. ~ Fiber Resin 
NAS-9 IV Interply HMS;'S-glass Epoxy 4617 
-13 IV Interply AS/Kevlar Epoxy 1+617 
-78 IV Intraply AS/Kevlar Epoxy 4617 
NAS-36 IV Intraply HMS/S-glass PMR-15 polyimide 
-76 IV Intraply AS/S-glass PMR-15 polyimide 
NAS-6 IV Interply AS/S-glass PPQ 
-10 IV Interply lIMS/C-glass PPQ 
The physical properties of the fabricated composites are listed in Table XL. All 
testing was carried out in triplicate. For convenience the composites are identified 
using the same numbers as used in Tasks I, II and III. The two polyimide laminates 
had a lower total fiber content (N50 v/o) than the average .fiber volume (-6o-65 via) 
which the majority of composites contained throughout the program. The results are 
discussed without normalizing the polyimide data to the average fiber volume. 
5.1 Interlaminar Shear Strengths 
Shear strengths determined at -74.6°0 (-100°F), 1~·9°C (300°F) and 315°0 
(600°F) for the seven J,aminates are listed in Table XLI and shown graphically in 
Fig. 66. 
In general, shear strength increased with decreas'ing temperature. The 
magnitude of the increase when cooling from room temperature to -74.6°c varied 
depending upon the resin matrix and ply construction. AS/S-glass/polyimide-intraply, 
AS/Kevlar/epoxy-interply and AS/S-glass/PPQ-interply showed significant increases 
in shear with drop in temperature while AS/Klev1ar/epoxy-intr81?ly" HMS/S-glass!epoxY-
interply and HMS/S-glass/polyimide-intraply gave only minor increases. The m~sl 
S-glass!PPQ-interply laminate had .a lower shear strength at -74.6°0 than at room l 
temperature. This latter type of behavior has been reported in other pp~ laminates i 
wi th HMS reinforcement (Ref. 12). ... I 
f 
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Table XL 
Physical Properties of Task n Hybrid Composites 
vlo 
vlo Fiber 
Composite Composition Density Total vlo vlo Ratio 
No. T7pe Resin glcc Fiber Resin ~ (actual) 
NAS-78 IV Intraply Epoxy 1.55 AS-51.2 38.0 l.2 AS-84.2 
Kevlar-9.6 Kev1ar-15.8 
NAS-l3 IV Interply Epoxy 1.59 As-61.l 31.0 1.4 AS-90.8 
Kevlar-6.2 Kevlar-9·2 
NAS-9 IV Interp1y Epoxy 1.65 HMS-33.9 49.1 2.4 HMS-70 
s-14.6 S-30 
NAS-76 IV Intrap1y PI 1.63 AS-38.1 42.7 4.5 AS-72.3 
s-14.7 S-27.7 
NAS-36 IV Intrap1y PI 1.64 HMS-35.0 45.2 5.7 HMS-71.5 
s-14.0 s-28.7 
NAS-6 IV Interp1y PPQ 1.62 AS-55.1 41.1 0 AS-93.55 
S-3.8 8-6.45 
NAS-lO IV Interp1y PPQ 1.66 HMS-55.1 32.2 4.7 i114S-87.3 
S-8.0 8-12.7 
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Table XLI 
Interlaminar Shear Strength of Hybrid Fiber Composites 
Temperature Effects 
Interlaminar Shear Strength,a 
Composite 
lio. 
NAS-78 IV 
NAS-13 IV 
NAS-9 IV 
NAS-76 IV 
NAS-36 IV 
liAS-6 IVb 
NAS-I0 rvc 
Composition 
AS/Kev1ar /Epox;[ _ 
AS/Kevlar/Epoxy 
HMS/S-glass/Epoxy 
AS/S-glass/PI 
HMS/S-glass/PI 
AS/S-glass/PPQ 
HMS/S-glass/PPQ 
as/n = 4/1, average of three tests 
bShear strength at RT = 11,900 psi 
cShear strength at RT =6800 psi 
Construction 
Type 
Intraply 
Interply 
Interply 
Intraply 
Intraply 
Interply 
Interply 
85.0 
118.5 
70.5 
124.8 
54.5 
105.5 
37.7 
MN/m2 (l!si) 
-74.6°c l:4~oC 315°C 
(13,~50) 58.8 (8543) 
(17,201) 50.0 (7260) 
(10,230) 25.8 (3750) 
(18,100) 62.6 (9100) 37.8 (5485) 
(7910) 44.7 (6490) 29.2 (4230) 
(15,310) 65.5 (9500) 40.9 (5940) 
(5473) 41.8 (6063) 14.1 (2040) 
'""" ·":"'H"'~">'."· ~.",_ ~ -'1-"" 
INTERLAMINAR SHEAR STRENGTH VARIATION WITH TEMPERATURE 
HYBRID COMPOSITES 
FIG. 66 
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The change in shear strength with increasing temperature (above RT) was 
also varied with the epoxy laminates showing more rapid strength losses than the 
PPQ or PI systems. At 315°C the high temperature resin matrix laminates with 
AS/S-glass reinforcement gave nearly the same shear strength regardless of ply 
construction (inter or intraply) or matrix resin, PI or PPQ. With the HMS/S-glass 
laminates the PI intraply laminate had a signi.ncantly higher strength than the 
PPQ interply system. 
In the epoxy systems the effect of ply construction on 149°C (300°F) shear 
strength was also apparent. AS/Kevlar reinforcement with the intraply configura-
tion showed significant improvement in strength retention over the interply 
construction even though the latter has a higher total fiber content (67%) with 
a lower Kevlar 49 content (6%). Evidence of the out-of-plane shear fracture, 
typical of the tow-by-tow construction, was found in the tested intraply laminate 
which would account for the superior strength retention. 
5.2 Flexural Strength and Modulus 
The flexural properties of the seven composites measured at -74.6°c, 149°C, 
and 315°C are listed in Tables XLII and XLIII. 
Variations in flexural strengths were minor in the two PPQ lalllinates each 
having essentially some strength at -74.6° and 149°C. Strength decreased rapidly, 
however, from 149° to 315°C. The two polyimide composites behaved similarly in 
that both had lower strengths at 149°C than at -74.6°c. The decrease in strength 
from -74.6 to 315°C is linear with the AS/S-glass laminate having the greatE~r 
strength at all temperatures. The t,hree epoxy laminates all gave rapid strength 
losses from room temperature to 149°C. Two of the composites decreased in strength 
on cooling from room temperature to -74.6°c while the third, AS/Kevlar interply 
showed a slight increase in strength from RT to the low temperature. 
The differences in composite failure mode appeared to depend mainly upOIi 
the resin matrix rather than construction. The two interply PPQ laminates both 
failed in shear at -76.1~OC and 149°C and in compression at 315°C. The two intra-
ply PI composites failed in tension at -76.4°c, in tension and compression at 
149°C and in compression only at 315°C. The three epoxy composites interply and 
intraply each failed in tension at -76.4°C and in compression at 149°C. Thus, at 
elevated temperatures, in particular, the softening or thermoplastic nature of 
the matrix appears to have an effect on the failure modes. 
The change in flexural modulus with temperature was also different with 
the various matrix resins used. The polyimide systems showed only slight modulus 
change from 149°C to 315°C. The AS/S-glass laminate had the same moiiU:l.us at all 
temperatures while the HMS/S-glass laminate gave a somewhat higher modulus at 
-74.6°c than at 315°C. The PPQ composites gave slight, variations in modulus 
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Table XLII 
Flexural Strength of Hybrid Fiber Composites 
Temperature Effectsa 
Flexural Strength, 
Composite Construction (~si x 10 3 ) GN/m2 
No. Composition Type 
-74.6°c 149°C 315°C 
HAS-78 IV AS /Keyla:t.'!Epoxy Intraply (240) 1.66 (125 ) 0.86 
NAS-13 IV AS/Kevlar/Epoxy Interply (293) 2.02 (117) 0.806 
NAS-9 IV ill-ISIs/EpOxy Interply (163 ) 1.12 (94) 0.648 
NAS-76 IV AS/S/FI Intraply (195) 1.34 (138) 0.95 (63.6) 0.44 
NAS-36 IV ill·iS/S/PI Intraply (144) 0.99 (92.9) 0.64 (57.66) 0.398 
iifAS-6 XV As/s/PPQ Interply (115.5) 0.77 (91.9 ) 0.634 (36.7) 0.253 
NAS-10 IV ill"lS/S/PPQ, Interply (160) loll (152) 1.05 (29.85) 0.206 
aA11 data average of three tests. SiD = 32/1 three point loading. 
-~ - .... a ••• ~."~-"" ... - •. ~uL.."-~~,,-....... '-~ ...... ~i..w""-;~~,.;.,.iu,~~~~ ... ;.,· .... ,~l~>.~~~~~~,.~~~";:,i~. 't.~,....\~,.,.. ,~,.::..~ .. " ... j'" ~~ ,~.,L~f1',w,I\~,,,~ .... "i." . ..i.'" •• ~ __ -""" • ,;.: """'''''''':''''''_''~l.. 
• 
~ 
I 
I~-
I " ~ 
I-' 
V1 
0:> 
Table XLIII 
Flexural Modulus of Hybrid Fiber Composites 
Temperature Effectsa 
Flexural Modulus 
Composite Construction ~Esi x 106 ) GN/m2 
No. Composition Type -74.6°c 149°C 315°C 
NAS-78 IV AS/Kevlar/Epoxy Intraply (12.43) 85.5 (15.5) 107 
UAS-13 IV AS/Kevlar/Epoxy Interply (17.5) 121 (19.55) 135 
NAS-9 IV HHS/SjEpoxy Interp1y (16.9) 111.65 (14.2) 98 
1'fAS-76 IV AS/S/PT Intrap1y (11.22) 11.4 (11.33) 77.5 (9.7) 67 
,NAS-36 IV liMS/S/PI Intraply (17.7 ) 122 (13.03) 90 (12.3) 85 
NAS-6 IV AS/S/PPQ Interply (15.5) 107 (17.4) 120 (7.15) 49.2 
NAS-IO IV IDI1S/S/PPQ Interply (28.4) 196 (26.3) 181.5 (9.65) 66.5 
aAl1 data average of three tests, SID = 32/1 three point loading 
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between -76.4° and 149°0 vTith sharp decreases occurring up to 315°C. The three 
epoxy laminates each peaked at room temperature with only the AS/Kevlar interply 
laminate showing no modulus reduction from RT to the 149°0 level. 
5.3 Pendulum Impact Strength (Thin Specimens) 
The results of the Charpy impact test at the three test temperatures, 
-76.4'; 149°, and 315°C, as well as room temperature are listed for each of the 
seven selected laminates in Table XLIV in terms of Pi, Pmax and total impact 
energy. 
In all cases except for one, the Pi and Pmax loads were the same. The 
exception was the AS/S-glass/PPQ interply laminate which showed fracture initiation 
slightly below ·the highest load capability prior to catastrophic failure. The 
load-time traces of the AS/S/PI intraply (NAS-76 IV) are shown in !<'ig. 67 to 
illustrate the effect of temperature on impact load. 
The measured total impact energy variation of the seven laminates with tem-
perature is illustrated graphically in Fig. 68. The three epoxy laminates each 
peak at room temperature with a slightly lower impact energy at 149°C than at 
-74.6°0. The AS/Kevlar interply composite resulted in the highest impcwt strength 
at room temperature but the HMS/S-glass interply was the best system at -74.6 
and 149°C of the three epoxy matrix laminates. 
The two PPQ laminates behaved similarly in that little change in impact 
strength occurred from -74.6 to 149°C followed by a more marked decrease up to 
315°0. As would be expected the AS/S-glass laminate had double the impact energy 
of the HMS/S-glass up to 149°C and was 1.5 times greater at 315°C. The two 
polyimide systems proved to be the most interesting of the seven lroninates. The 
HMS/S-glass intraply composite gave a substantial decrease in impact resistance 
from -74.6 to 1149°C (approximately 50% loss). At 315°0, however, the impact 
strength was higher than the value measured at room temperature. This increase 
in strength at the elevated temperature may be due to thermoplasticity or plastic 
flow in the resin matrix although there was no visual evidence in the fractured 
specimens which would indicate this to be the case. Further testing will be 
required to validate the present data. 
The AS/S/PI intraply system proved to have the best overall impact resistance 
over the temperature range investigated. The impact strength decreased uniformly 
from -74.6 to 315°C. The high temperature impact strength was 75% of the strength 
found at -7 if. 6°0 and 85% of the room temperature Ert;rength. It should be noted 
that the total fiber content of the laminate was only 52 vlo and that if normaliz.ed 
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Table XLIV 
Pendulum Impact Energy Variation with Temperature ill 
Hybrid Fiber Compositesa 
ImEact Load EnerSi.Y: 
-
EnerSil/Area 
"\ 
Pi = Pmax 
Joules/cm2 ComEosite Newtons (lbs) Joules (ft-1bs) (ft-1b/in2 ) : i 
• ,
HMS/S/Epoxy-Interp1y r 
NAS-9 IV 1 t 
RT 3.36 (2.4) (83.2) } 17.9 ~ 
-100 5,600 (127) 2.78 (1. 99) 15.3 (71.0 ) j i 
300°F 6,660 (150) 2.54 (1.81 ) 13.9 (64.5) ~ l , 
AS/Kevlar /Epoxy-Intrap1y , 
NAS-78 IV , -; 
RT 14,900 (335) 3.52 (2.52) 15.2 (70.5) 1 
-100 11,700 (263) 2.48 (1.77) 11.2 (52.0) 
300°F 12,000 (270) 2.39 (1. 71) 10.35 (48.0) I 
.[ 
J 
AS/Kevlar/Epoxy-Interp1y 1 { j 
NAS-13 IV ~ 1. . 
RT 12,600 (283) 4.34 ( 3.1) 22.6 (105) -ii, 
-100 11,000 (247) 2.73 (1.95 ) 14.0 (64.8) 
300°F 11,000 (247) 2.16 (1. 54) 10.8 (50.0) 
AS/S/PI-Intraply ~ 
NAS-76 IV 
, 
1 
RT 14,500 (327) 4.0 (2.95) 17.1 (79.2) 1 
16,000 (360) 4.63 (3.33) 19.45 (90.2) ;; -100 ~ -( 
300°F 111,200 (320) 3.7 (2.64) 15.75 (13.0) r .~. ~ 
600°F 9,200 (207) 3.4 (2.43) 14.5 (67.1) i ;~ , 
HMS/S/PI-Tntrap1y i '1 
NAS-36 IV i 
I 
RT 7,770 (175) 2.84 (a.03) 12..8 (59.2) 
-100 6,900 (155) 3.96 (2.83) 19.4 (89.8) 
300°F 6,980 (157) 2.46 (1.76) 10.8 (50.0) 
600°F 6,230 (140) (1.94 ) (64.2) . 2.72 13.9 . 1. i 
i 
. 
.. i , 
I 
§ 
Table XLIV (Cont'd) 
ImEact Load Ener~ Energy/Area 
•• Pi = Pmax. 
Composite Newtons (lbs) Joules (ft-1bs) Joules/ cm Z (ft-1b/in Z) 
HMsjSjPPQ-Interp1y 
NAS-10 IV 
RT 5,480 (123) 1.25 (0.89) 7.0 (32.4) 
-100 6,000 (135) 1.25 (0.89) 7.0 (32.4) 
300°F 6,900 (155) 1.11 (0.79) 6.26 (29.0) 
600°F 5,350 (120 ) 0.825 (0.57) 4.5 (20.9) 
ASjSjPPQ-Interp1y 
NAS-6 IV 
RT 7,340 (165) 3.22 (2.3) 111.05 (65) 
-100 6,800 (153) 3.3 (2.36) 14.07 (65.2) 
300°F 6,100 (137) 2.98 (2.13) 13.1 (60.6) 
600°F 6,800 (153) 1.69 (1.21 ) 7.46 (34.6) 
a All data average of three tests at each temperature 
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PENDULUM IMPACT ENERGY VARIATION WITH TEMPERATURE 
HYBRID FIBER COMPOSITES 
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to a fiber content of 65 v/o, used throughout the program" would result in higher 
overall impact resistance values. If this extrapolation proves valid, once again 
the AS/S-glass tow-by-tow configuration appears to be the best configurationeval-
uated in terms of mechanical properties and impact strengths both in terms of 
strength retention with increased hybrid fiber (glass) content,temperature, and 
resin matrix variation. 
5.~ Coefficient of Thermal Expansion 
Expansion coefficients were measured for the seven laminates in both the 
longi tudinal and transverse directions. Temperatures ranged fJ;om -73.4 °c (-100°F) 
to 149°C (300°F) for the three epoxy laminates and from -73.4°0 (-100°F) to 
315°0 (600°F) for the polyimide and polyphenyl~uinoxaline composites. 
As would be expected in the longitudinal direction the thermal expansion 
was reflected by the fiber reinforcement. The laminates containing AS graphite 
fiber shoved a slightly posi ti ve expansion coefficient, from zero to less than 
+1 in. /in. x 10- 6 vhile the laminates reinfo~J:'ced with HHS graphite had a slightly 
negative coefficient of the same order of magnitude. 
The transverse thermal expansion coefficients for the seven laminates are 
listed in Table XLV. Also listed are the 'rg temperatures or inflectj.on points 
obtained during the tests. All laminates showed a lov.r temperature inflection in 
the -24 ° to _40°0 range. This has been found previously in several different 
types of epoxy laminates. The upper temperature Tg values reflected the type 
of resin matrix with the polyimide and PPQ composites showing inflection points 
between 301 and 315°0 while the three epoxy laminates were between 55° and 65°0. 
With one exception the expansibn coefficients of the epoxy laminates were nearly 
twice those of the polyimide and PPQ composites. The one exception was the 
NAS-13IV laminate AS/Kevlar/epoxy with interply construction 1-Thieh gaye an 
expansion value similar to NAS-76rv AS/S-glass/PI intraply composite. No 
reason for this one exception is apparent at the present time. Duplicate runs 
on different specimens gave the same results. 
~ 
, 
• Table XLV 
Transverse Thermal Expansion Coefficient of Hybrid Fiber Composites 
Transverse _ a 
Composite Construction Therm. Exp. Coeff. a x 10-6 Tg 
lio. Composition Type em/em/oK (in./in./oF) °c (OF) 
HAS-78 IV AS!Kevlar/Epoxy Intrap1y 124 27 -35.5, 57.2 -32, 135 
-13 IV AS/Kevlar/Epoxy Interp1y 81.5 17.7 -34.4, 65 -30, 149 
-9 IV m,IS /S /Epoxy Interp1y 143.5 31.2 -43.3, 54.4 (-39, 130) 
-76 IV AS/S/PI Intrap1y 80 17.4 -41, 315 (-37, 600) 
!-> 
C\ 
-36 IV HlYIS/S/PI Intrap1y 53 11.5 -24.4, 301 -22, 572 \J1 
-6 IV AS/S/PPQ Interp1y 70.5 15.33 , 302 ( - , 576) 
,..10 IV F...~/S/PPQ Interp1y 65.8 14.3 -24.4, 301. 5 (-22, 575) 
~emperature range -73.4°c to 149°C for epoxy and -73.4° to 315°C for po1yimide and PPQ 
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VI. GENERAL CONCLUSIONS AND RECOMMENDATIONS 
1. S-glass is, in general, a better hybrid fiber reinforcement than 
Kevlar 49 for mechanical strength/impact property correlations in graphite 
reinforced resin matrix composites. 
2. Additions of Kevlar 49 to Hl~S graphite do not provide significant 
improvements in impact properties regardless of ply construction. 
3 • With the intraply composites the t01'T-by-tow configuration is superior 
to the dispersed fiber type in pendulum impact behavior. This is primarily 
due to the out-of-plane shear fracture mode of the former configuration. 
4. The standard pendulum impact test is shear limited. With thinner 
specimens the inf'luence of shear failure on total impact decreases. A defin
itive 
change in fracture mechanism occurs near the 0.508 cm (0.200 in.) thickness range. 
5. Shear and flexural stress interaction diagrams were constructed which 
demonstrate the importance of span-to-depth ratio in the pendul'lm impact tes
t. 
It was shown that standard Charpy impact data should not be used for compari
ng 
materials if the intended application is to involve loading at high L/h valu
es. 
6. The ballistic impact parameter (E/V) which relates projectile energy 
and impact affected volume of the specimen provides improved correlation bet
ween 
ballistic impact and pendulum impact (thin specimen) data. The scope and value 
of the parameter as it relates to composite structure, angle-ply, fiber 
composition and specimen thickness re~uires further study and it is recommen
ded 
that such an investigation be carried out. 
,. Damage threshold levels as measured in thin Charpy hybrid specimens 
were lower than those measured with homogeneous graphite specimens. Thus, i
t 
appears that hybridization did not increase the resistance to initial fractu
re. 
However, total energy absorption or resistance to catastrophic failure was 
increased. 
8. The best over-all laminate type in terms of performance was the AS/ 
S-glass intraply (tow-by-tow) system. In terms of fiber material costs the 
composite is 25% less than homogeneous AS while maintaining the srune f'lexural 
and shear strengths and flexural modulus with at least a 134% improvement in 
impact strength. This f'iber combination performs e~ually well with both epo
xy 
and polyimide (PMR-15) matrix resins and shows only a 25% decrease in impact 
resistance over a temperature range of -74.6° to 315°C. 
--
h 
It is recommended that further investieation of the tow-by-tow AS/S-
glass composition be carried out to determine (l) the lev\el of hybdd fiber 
which can be added before a decrease in flexural strength and modulus occurs, 
(2) the effect of fiber tow spacing on composite properties, (3) the optimum 
impact level vThich can be obtained, and (4) the influence of this fiber type 
on the thermal fatigue characteristics of reinforced resin matrix composites. 
9. It is also recommended that ballistic impact studies be yxtended to 
include diamond shaped specimens and angle projectiles. This work should be 
carried out using a minimum of three of the best hybrid fiber combinations 
tested in Tasks III and IV of this program. 
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VITI. APPENDIX 
8.1 Fabrication of Epoxy Matrix Composites 
All epoxy resin used in the program was Union Carbide ERLA-4617 with Furan 
hardener 9245. The fabrication procedure, based on a sligbtly modified published 
procedure (Ref. 13) was as fOllows: 
a. A mixture of' ERLA-4617 and Furan hardener 9245, 100/24 wt ratio; 
was prepolymerized at 85°0 (184.5°F) for 2 hrs, cooled, and 
diluted to 50 w/o solids with methyl ethyl ketone (MEK) solvent. 
b. Prepregs of' the graphite, glass and Kevlar 49 III were drum wound 
by drawing the fiber through the resin soluti.on. Prepregs not 
used immediately were stored at -17.8°c (OOF) in sealed bags. 
c. Prepregs were "B" staged 45 min at 80°C (176°F), prior to cutting, 
in a forced draft oven. 
d. The cut prepreg was layed up in the desired mold, inserted into a 
press at room temperature and molded as follows: 
Raise temperature at contact pressure to 93.3°C (200°F) and 
hold one hour. ThF.' mold may be inserted into a preheated 
press at 200°F if ~0nvenient • 
• Increase temperature to 121°C (250°F) at contact pressure and 
hold 40-60 min or until gelation occurs. 
Pressure to 6.89 X 10 5 N/m2 (100 psi) at 121°C (250°F for 
10-15 min. 
Increase pressure to 17.2 x 10 5 N/m2 (250 psi) and temperature 
to 176.7°0 (350°F) and hold 2 hrs. 
Release pressure, transfer hot mold to a 176.7°C (350°F) air 
oven and ?ostcure 19 hrs. 
Cool, remove composite and cut into desired test specimens • 
8,2 Fabrication of PMR-15 Polyimide Matrix Composites 
The PMR-15 resin was prepared at 50% solids in methanol as described in 
Ref. 9 from the dimethyl ester of 3,3',4,4'-benzophenone tetracarboxylic acid 
(BTDE) 4,4'-methylenedianiline (MDA) and the monomethyl ester of 5-norbornene-
2,3-dicarboxylic acid. Prepregs were prepared by drum winding as described 
above. After winding the wet tape was dried 1 hr with a hot air dryer prior to 
removal from the drum. The required plys were cut to fit the mold and the layup 
was "B" staged in the :nold at :204°c (400°F) for three hrs. stops were inserted 
in the mold ends during this time to prevent any pressure on the plys. The mold 
was then inserted into a preheated press at 315°C (600°F) under contact pressure 
for 10 min. The pressure was then incre/;Lsed to 6.895 x 10 6 N/m2 (1000 psi) and 
held for one-half hour. The mold was al:Lowed to cool slowly to 93.3°C (200°F) 
before removal from the press. 
8.3 Fabrication of Polyphenylquinoxl1.1ine, PPQ, Matrix Composites 
The PPQ resin was prepared from stoichiometric quantities of 3,3',4,4'-
tetra-amirtobenzophenone (TABP) and 4,4'-oxydibenzil dissolved separately at 30% 
solids in N-methylpyrroli&one. After combining the warm solutions, prepregs 
were prepared by drum winding as described above for the epoxy system. After 
winding the wet tapes were dried 2 hrs with a hot air dryer prior to removal 
from the drum. The volatile contents of the tapes prepared ranged from 16 to 24 
wt percent. 
The cut prepreg plys were stacked in the mold and the composites fabricated 
as follows: 
• Insert mold into 329°C (625°F) preheated press. 
• Hold 5 min at contact pressure. 
At 329°0 increase pressure to 6.2 x 106 N/m2 (900 psi) over a 5 min 
period, "bumping" the press join times. 
• Hold for 1 hr at 6.2 x 106 N/m2 and 329°C. 
• Raise temperature to 370.7°C (700°F) at the same pressure and hold for 
1 hr. 
Cool press to 204°c (400°F) before removing mold. 
• Remove composite from mold and cut into desired specimens. 
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8.4 Intraply (Tow-by-Tow) Laminates 
The uARL tow-by-tow drum winding technique for producing prepreg to be used 
in making the intraply construction did not involve an ironing step to flatten the 
wound tows. Consequently the number of fiber bundles per inch of width was greater 
than with the commercially available tow-by-tow construction. The UARL prepreg con-
tained on the average of 6 tows S-glass or Kevlar 49 and 6 tOi-TS of graphite per inch 
of width. A tow-by-tow prepreg purchased from 3M Co. made of AS graphite and S-
glass contains only three tows each of graphite and glass per two inches of width. 
Figure 69 illustrates the difference in tow width of the prepregs. The effect of 
the tow width on mechanical properties remains to be determined. 
8.5 Testing Procedures 
8.5.1 Flexural and Interlaminar Shear strengths 
Flexural and shear specimens were molded in a 3.8 cm x 12.7 cm (1.5 in. x 
5 in.) mold except for one laminate which required a 20.32 cm (8 in.) length. 
Initially, flexural tests were carried out at SiD = 32/1 using a 4 point bend test. 
However, all specimens failed in a shear mode rather than bending. The shear 
failure initiated in the region of the supports. Thus, the resulting flexural 
strengths were lower than anticipated. To eliminate shear failure, flexural testing 
was changed to SiD = 32/1 three point loading. Th~= resulting flexural strengths 
were in the expected range and the failure occurred in the bending mode. In 
addition, this type of bending test more closely approaches the type of bending 
associated with the 3-poirlt Charpy impact test used for determining the impact 
strength of the fabricated composites. A crosshead speed of 0.05 irr.-min- I was 
used in all tests. 
Interlaminar shear strengths were in the anticipated range (SiD = 4/1) with 
the exception of' the AS graphite composite NAS-1 which is being retested., and all 
composites failed in a shear mode. All flexural and shear tests were carried out 
in triplicate. 
8.5.2 Tensile Strength 
For longitudinal tensile the specimen confi~lration shown in Fig. 70 was 
used. The small cross sectional width was necessary to maximize the bond. length 
to cross sectional area ratio for the specimen. 
Transverse tensile specimens were 12.8 cm (5 in.) long and 1.28 cm (0.5 in.) 
wide with 2.54 em (1. 0 in.) gage length. Fiber glass doublers were used for both 
types of specimens. 
171 
FIG. 
INTRAP Y TOW- BY - 0 ) HYB ID IB R PR PR G 
AS GRAPHI IS- GLASS 
11/10-310-1 
172 
.
.
 ~
 
en 
w
 
.
.
.
 
~ ~ (,) Q w (,) a: o L&-2 -w a: ... 2 w ~ « .... L&-a: o L&-en 2 w ~ (,) W 5; W .... en 2 w ... 
~ It) <if 0 0 
173 ~t t Z ... + ~l A z (') 
-i CI) 
o
 
.
.
 
o
 o 
In 
In 
W
 
Z ~ 
!2 :I: I-Z w ~ ~ ~ 
FIG
.70 
All tensile testing was carried out using a Tinius-Olsen tent machine and K 
type grips. Crosshead speed was 0.01 in./min. Specimen alignment was provided 
by the loading extension rods which have spherical bearing surfaces at the upper ~ 
and lower heads of the testing Inachine. For room temperature tests, strains were 
measured by strain gages 'bonded to the front and back of the specimen to eliminate 
bending effects or a deflectometer. The data reported for each test includes the 
following: elastic modulus, yield strength, ultimate strength, and total strain 
to failure. In addition, the complete stress-strain curve for each test is kept 
on reco,rd. 
8.5.3 Compressive Strengths 
The Celanese Corporation designed compression jig which allows the compressive 
forces to be induced by shear stresses on bonded tabs in a collet type grip which 
does not come in contact with the test specimen which was used for low compression 
testing. The special design specimen is shown in Fig. 71. The jig was inserted in 
a Tinius-Olsen four screw universal testing machine and the specimen tested at a 
constant crosshead speed of 0.05 in./min. 
8.5.4 Thermal Expansion 
The thermal expansion apparatus consists oi' a 5/8 in. diameter vertical quartz 
tube housed in a Haskins tube furnace 13 in. long. The lower end of the quartz 
tube is sealed with a solid quartz rod about 1 in. long. The sample is placed on 
the lower rod, and a second rod centered in the tube connector. The sample is a 
water cooled linear variable differential transformer (LVDT). The LVDT reads out 
on the y-axis of a Mosely 703A-X-Y recorder, and temperature of the sample which 
is sensed by a chromel-alumel thermocouple reads out on the x-axis. The system 
is frequently calibrated against a single crystal MgO standard. Composite speci-
mens were tested over a t~nperature range of -73.4°c (-100°F) to 315°C (600°F). 
8.5.5 Instrumented Pendulum Impact (Charpy) 
Impact specimens were fabricated in a 3.8 em x 6.1 cm (1. 5 in. x 2.4 in.) 
mold. Three test specimens, 5.5 cm x 1 cm x 1 cm (2.165 in. x 0.394 in. :x 0.394 
in.) were cut from each composite. Testing was carried out at room temperature 
using a 370 Joule (264 ft-lb) Charpy impact machine. The striker was instrumented 
with a strain gage to provide a load vs time trace of ear-.'l impact. The thin 
Charpy specimens were fabricated in the same mold to provide three specimens per 
molding. The thin specimens were tested using a Physmet Corp. Impact Tester. Th\~ 
range of this instrument is 0-33.6 Joules (0-24 ft-lbs). Load-time tra.ces were 
also obtained for each thickness range on this instrument. 
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8.5.6 Ballistic Impact 
A high pressure air carrier was used for firing gelatin spheres. Projectile 
velocity just prior to impact was determined by using a trip-wire system to measure 
the time for the projectile to cover a fixed distance of 45.6 cm (18 in.). The 
General Radio Model 1192 timer is accurate to vri thin 3 microseconds and is traceable 
to the U.S. Bureau of Standards. The approximate projectile velocities 'Tere selected 
by varying tank pressures to the air gun according to a predetermined calibration 
curve. The projectile gun was capable of firing 1.27 cm (0.5 in.) diameter pro-
jectiles with a reproducible velocity range from 30.4 mlsec (100 fps) to over 273.6 
mlsec (900 fps). 
The ballistic impact specimen was a rectangular parallelepiped 22.86 em (9 in.) 
long, 5.08 cm (2 in.) wide and approximately 0.254 cm (0.100 in.) thick. All speci-
mens were cantilevered and impacted normal to the specimen surface at the center of 
the sample. The center point was located 11.3 cm (4.5 in.) from the supported end 
of the specimen at mid width. 
Cantilevering was accomplished using a pair of compliant fiber glass doublers 
5.08 cm (2 in.) wide and 3.81 cm (1.5 in.) long. The doublers were held in place 
against the specimen with a vise. The specimen with doublers was inserted 2.51-lcm 
(1 in.) into the vise. The 1.27 cm (0.5 in.) length of the doublers which extended 
beyond the vise was uniformly tapered in thickness to minimize the possibility of 
specimen breakage at the gripped end. 
Gelatin, the projectiles used to simUlate birds were fabricated from a solution 
of gelatin and water. The use of this material has been shown to be a most satis-
factory substitute for birds in impact tests of jet engine components. 
Advantages of using this material are: ease of fabrication to any shape and. 
mass, repeatability, sufficient toughness to withstand acceleration to velocities 
approaching the speed of sound, and damage to turbojet structures similar to that 
caused by actual bird carcusses. 
Acid-processed pigskin gelatin is dissolved in hot tap water to make a 20% 
solution by weight. After standing to allow bubbles to surface, it is poured into 
any suitable mold and allowed to set. There is virtually no volume change ifhen 
cold. The denSity is approximately 1.02 g/ce. 
Nodulus retention measurements Vere conducted in conjunction with the impact 
tests in order to measure the amount of damage which occurred. 
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Cantilever beno.ing and shear moduli of the test specimens were measured befo.t'e 
and after the impact test using dead .... 'eight loadins. Care was taken to insure that 
the specimens were clamped in th~; same manner as in the illlpo..ct test. 
8.6 Materials 
The materials used during the program were obtained from the following vendors: 
Resins and Intermediates 
Methy1enediani1ine (MDA) 
Tetracarboxy1ic Benzophenone 
Dianhydride 
Nadic anhydride 
3,3' ,4,4'-tetraamino-
benzophenone 
P ,~?' -oxybis (benzil ) 
ERLA-4617 epoxy 
Furan 9245 hardener 
Fibers 
AS and EMS graphite 
Kevlar 49 III 
S-glass (20 end) 
S-glass (12 end) 
Source 
Aldrich Chern. Co. 
Eastman 
Eastman 
Burdick & Jackson 
Whittaker R&D 
Union Carbide Corp. 
Furan Inc. 
Hercules Inc. 
DuPont 
1"erro Inc. 
Owens-Corning 
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